A Review on Silver Nanoparticles: Classification, Various Methods of Synthesis, and Their Potential Roles in Biomedical Applications and Water Treatment

Muhammad Zahoor 1,+, Nausheen Nazir 1, Muhammad Iftikhar 1, Sumaira Naz 1, Ivar Zekker 2,*, Juris Burlakovs 3, Faheem Uddin 4, Abdul Waheed Kamran 5, Anna Kallistova 6, Nikolai Pimenov 6 and Farhat Ali Khan 7

Citation: Zahoor, M.; Nazir, N.; Iftikhar, M.; Naz, S.; Zekker, I.; Burlakovs, J.; Uddin, F.; Kamran, A.W.; Kallistova, A.; Pimenov, N.; et al. A Review on Silver Nanoparticles: Classification, Various Methods of Synthesis, and Their Potential Roles in Biomedical Applications and Water Treatment. Water 2021, 13, 2216. https://doi.org/10.3390/w13162216

Abstract: Recent developments in nanoscience have appreciably modified how diseases are prevented, diagnosed, and treated. Metal nanoparticles, specifically silver nanoparticles (AgNPs), are widely used in bioscience. From time to time, various synthetic methods for the synthesis of AgNPs are reported, i.e., physical, chemical, and photochemical ones. However, among these, most are expensive and not eco-friendly. The physicochemical parameters such as temperature, use of a dispersing agent, surfactant, and others greatly influence the quality and quantity of the synthesized NPs and ultimately affect the material’s properties. Scientists worldwide are trying to synthesize NPs and are devising methods that are easy to apply, eco-friendly, and economical. Among such strategies is the biogenic method, where plants are used as the source of reducing and capping agents. In this review, we intend to debate different strategies of AgNP synthesis. Although, different preparation strategies are in use to synthesize AgNPs such as electron irradiation, optical device ablation, chemical reduction, organic procedures, and photochemical methods. However, biogenic processes are preferably used, as they are environment-friendly and economical. The review covers a comprehensive discussion on the biological activities of AgNPs, such as antimicrobial, anticancer anti-inflammatory, and anti-angiogenic potentials of AgNPs. The use of AgNPs in water treatment and disinfection has also been discussed in detail.

Keywords: silver nanoparticles; physical methods; chemical methods; green synthesis; classification; AgNPs in water treatment

1. Introduction

Nanotechnology has been considered one of the essential fields in current science that permits scientists to acquire remarkable nanoparticle (NP) size innovations. By definition, particles having diameters below 100 nm are referred to as NPs. Different strategies are used to prepare metal NPs with the smallest possible size. Broadly, the methods may be categorized into chemical, physical, photochemical, and organic techniques [1].
synthesis of NPs from several metals, such as palladium, tin, copper, silver, and gold, has acquired greater interest due to their specific properties and application in different fields. Over the period, various synthetic techniques for the synthesis of NPs are constantly reported. However, most of the available strategies are expensive and not eco-friendly. Apart from the type of synthetic method used, different factors, such as temperature, dispersing agent, and surfactant, substantially impact the quality and quantity of the synthesized NPs in the long run. However, to obtain NPs with a particular shape, size, and better properties, scientists are looking for an eco-friendly route along with economic benefits. Considering the adverse outcomes of different techniques on living organisms, scientists prefer biogenic approaches for NP synthesis because they can produce NPs on a large scale with less or no risks to the environment [2]. In the biogenic approach of the synthesis, bacteria, fungi, algae, and plant extracts are used as a reductant for the fabrication of metal NPs [3].

Silver NPs (AgNPs) are extensively used in diverse fields, such as medicine, food, healthcare, and industrial purposes, because of their particular physical and chemical properties, morphology and distribution, size, shape, and high surface area. They have exhibited better applications in optical, electrical, and thermal devices with high electrical and heat conductivity and a wide area of organic chemistry-related applications. They are employed in medical device coatings, optical sensors, cosmetics, different pharmaceutical industry products, and the food industry. Their use in diagnostics, theranostics, and drug delivery as antimicrobial, anti-inflammatory, and anticancer agents is also worth mentioning [2,4,5]. They are utilized in electronics, mechanics, environment, biomedical, drug and gene delivery, catalysis, optics, space industries, energy science, chemical industries, single-electron transistors, light emitters, non-linear optical devices, and other applications. Over the past two decades, the field has flourished by manufacturing nano-metric size substances, creating a new subject of study because of AgNPs’ versatile applications in each area of life [6–9]. The review has put forward a detailed discussion about the classification, different synthetic techniques, biological properties, and applications of AgNPs alongside the biogenic methods used for NP production.

2. Classification of NPs

NPs are classified into inorganic, carbon-based, and organic NPs.

2.1. Inorganic Based NPs

Those NPs with no carbon atom in their composition, such as metal oxide and metal-based nano-sized particles, are categorized as inorganic NPs.

2.1.1. Metal NPs

Metals such as cadmium (Cd), aluminum (Al), copper (Cu), cobalt (Co), gold (Au), iron (Fe), silver (Ag), zinc (Zn), and lead (Pb) are famously reported in this category. They have unique properties based on their size and characteristics, including expanded surface area, pore size, the density of charge on the surface, cylindrical and spherical shape, color, amorphous, and crystalline structures. Environmental factors, including air, heat, sunlight, and moisture, also affect NP properties (Table 1) [10].

2.1.2. Metal Oxide NPs

As some metals have a higher tendency to make oxides, their oxides are prepared in an attempt to enhance their properties (Table 2). Iron within the presence of oxygen (O_2) at room temperature suddenly oxidizes to form iron oxide (Fe_2O_3) with improved reactive properties as compared to iron NPs (Table 2). NPs with improved properties, efficiency, and higher reactivity of metal oxide is synthesized like titanic oxide (TiO_2), silicon oxide (SiO_2), zinc oxide (ZnO), magnetic iron-ore (FeO_4), iron oxide (FeO_3), aluminum oxide (Al_2O_3), and cerium oxide (CeO_2). A literature study shows that such NPs have more extraordinary properties than metal NPs [11].
2.2. Organic-Based NPs

Organic-based NPs are non-hazardous and eco-friendly, conjointly referred to as nanocapsules (Figure 1). Ferritin, liposomes, micelles, and dendrimers are polymers or organic nano-sized particles with high sensitivity once exposed to light and heat. Because of these distinct characteristics, it is a much better alternative for researchers to prefer organic-based NPs for drug delivery. Its stability, drug-carrying ability, and adsorbing or entrapping drug specificity make them efficient and potential mediators for delivering a drug’s active ingredients. These NPs have peculiar surface morphology, size, shape, and composition. Organic NPs are used to inject the active ingredients to the particular site of action within the targeted drug delivery system [12].

![Figure 1. Structures of some organic NPs (a) dendrimers, (b) liposomes, (c) micelles.](image)

2.3. Carbon-Based NPs

NPs whose skeletons are wholly organized from carbon are referred to as carbon-based NPs (Table 3) [13], which have been categorized into graphene, fullerenes, carbon nanofibers, carbon nanotubes, black carbon, and activated carbon (Figure 2).

![Figure 2. Structures of carbon-based NPs (a) fullerenes, (b) graphene, (c) carbon nanotubes, (d) carbon nanofibers, and (e) carbon black.](image)
2.3.1. Fullerenes

Carbon-based NPs could be prepared of carbon atoms bonded through sp² hybridization having spherical form NP are known as fullerenes. Approximately 28 to 1500 atoms of carbon are combined collectively to form round-shape mono-layered fullerenes with a diameter up to 8.3 nm and poly-layered fullerenes with a diameter of 4–36 nm [14,15].

2.3.2. Graphene

Allotropic forms of carbon having a hexagonal structure with two-dimensional planar surfaces are called graphene. A single sheet of graphene has a thickness of 1 nm [13,14].

2.3.3. Carbon Nanotubes

Carbon nanotubes are synthesized through coiling the carbons of nano-foil graphene into hollow pipes with a diameter much less than 0.7 nm for monolayer, while for multi-layer, their length modifications range from micrometers to many millimeters, and their ends could either be closed or hollow [14,15].

2.3.4. Nanofibers of Carbon

Carbon nanofibers are prepared from nano-foils of graphene by coiling into cup or cone shape instead of regular cylindrical tubes [14,15].

2.3.5. Black Carbon

Black carbons are spherical-shaped amorphous materials with a diameter of 20–70 nm. The particles’ interactions are much higher, and combine in aggregates when about 500 nm agglomerates are formed [15].

| NP Type     | Reported Physio-Chemical Properties                                | References |
|-------------|--------------------------------------------------------------------|------------|
| Zinc NP     | Antifungal, antibacterial, anticorrosive, UV filtering             | [16]       |
| Lead NP     | Reactive, high toxicity, highly stable                             | [17]       |
| Copper NP   | Highly flammable solids, ductile, very high electrical, thermal conductivity | [18]       |
| Cadmium NP  | Insoluble, semiconductor of electricity                            | [19]       |
| Gold NP     | Reactive, interactive with visible light                           | [20]       |
| Cobalt NP   | Magnetic, toxic, absorb microwave, unstable                       | [21]       |
| Silver NP   | Disinfectant, antibacterial, absorbs and scatters light, stable   | [22]       |
| Aluminum NP | Large surface area, highly reactive, sensitive to sunlight, heat, moisture | [23]       |
| Iron NP     | Sensitive to water and air (O₂), reactive, unstable               | [24]       |

**Table 1.** Classification of metal NPs and their physio-chemical properties.

| NP Type                  | Reported Physio-Chemical Properties                             | References |
|--------------------------|----------------------------------------------------------------|------------|
| Aluminum oxide NP        | Large surface area, increased reactivity, sensitivity to sunlight, moisture, heat | [25]       |
| Zinc oxide NP            | UV filtering, antibacterial, anti-corrosive, antifungal         | [26]       |
| Cerium oxide NP          | Low reduction potential, antioxidant activity                   | [27]       |
| Magnetite NP             | Highly reactive, magnetic                                       | [28]       |
| Silicon dioxide NP       | Less toxic, stable, having the ability to functionalize many molecules | [29]       |
| Iron oxide NP            | Unstable, reactive                                             | [30]       |
| Titanium oxide NP        | Magnetic character inhibits bacterial growth, high surface area | [31]       |

**Table 2.** Classification of metal oxide NPs and their physio-chemical properties.
Table 3. Classification of carbon-based NPs and their physio-chemical properties.

| NP Type         | Reported Physio-Chemical Properties                                      | References |
|-----------------|-------------------------------------------------------------------------|------------|
| Fullerenes      | Semiconductor, safe and inert, transmits light based on intensity, superconductor, conductor | [32]       |
| Graphene        | Electrical and thermal conductivity, extreme strength, light absorption  | [33]       |
| Carbon Nanotubes| Flexible and elastic, high electrical and thermal conductivity, tensile strength | [34]       |
| Carbon Nano-fiber| High electrical and thermal frequency, shielding and mechanical properties | [35]       |
| Carbon black    | Resistant to UV degradation, high strength, electrical conductivity, high surface area | [36]       |

3. Various Methods Used for the Synthesis of NPS

Generally, the synthesis of NPs is carried out using three different methods given as follows.

3.1. Physical Methods of Synthesis

Among physical strategies, evaporation–condensation, spark discharging, and transformation are used for the synthesis of AgNPs. NPs of metals are also synthesized by the thermal breaking technique [37], with an average size within the range of 9.5 nm. Jung et al. [38] reported that metal NPs are prepared using a ceramic ware heater with a close heating area for evaporation of precursor materials. Results indicated that the amount of NPs would increase with the heating of the outside atmosphere. Once there is no flux of the surface heater, the assembly of NPs will increase over time. Even at high concentrations and heat, the spherical-shaped NPs without any agglomeration are determined [39]. AgNPs synthesized within the double deionized water without adding further surfactants is another approach of NPs production within which arc is discharged. The physical synthesis approach for AgNPs typically consumed energies, for instance, arc discharge, arc power, thermal, and so forth. The physical formulation technique is a well-liked method to synthesize AgNPs with massive quantities, although the preliminary cost of the equipment is relatively high with high energy consumption, solvent contamination, and lack of uniform distribution. Various physical methods used for the synthesis of AgNPs are presented in Table 4.

Table 4. List of various physical methods used for the synthesis of Ag NPs.

| Method Used          | Shape       | Size (nm) | References |
|----------------------|-------------|-----------|------------|
| Laser ablation       | Spherical   | 31        | [40]       |
| Laser ablation       | Spherical   | 12–29     | [41]       |
| Laser ablation       | Irregular   | 27–41     | [42]       |
| Small ceramic heater | Spherical   | 6–21.5    | [43]       |
| Thermal decomposition| Spherical   | 9.5       | [44]       |
| Laser ablation       | Spherical   | 27–120    | [45]       |
| Laser ablation       | Spherical   | 6.48      | [46]       |
| Thermal decomposition| Spherical   | 14.4      | [47]       |
| Laser ablation       | Spherical   | 4–18      | [48]       |
| Laser ablation       | Spherical   | 5–13      | [49]       |
| Laser ablation       | Spherical   | 20–51     | [50]       |
| Thermal decomposition| Spherical   | 4–7       | [51,52]    |
| Laser ablation       | Irregular   | 15–20     | [53]       |
| Laser ablation       | Spherical   | 7.9–16.2  | [54]       |
| Thermal decomposition| Spherical   | 8 ± 1.3   | [55]       |
| Thermal decomposition| Spherical   | 3.1–4.5   | [56]       |
| Thermal decomposition| Spherical   | 40–50     | [57]       |
3.2. Chemical Methods of Synthesis

Chemical methods (Table 5) essentially require metallic precursors, reducing agents, and stabilizing/capping agents. The reduction in silver salts involves nucleation followed by the growth of the NPs. The maximum potently used technique for the synthesis of stable NPs is the chemo-reduction technique. The substances used for AgNPs’ synthesis, including elemental hydrogen, ascorbate, citrate and borohydride thio-glycerol, and 2-mercaptoethanol, are toxic.

Besides, due to the potential sedimentation of NPs’ surfaces with chemicals, the synthetic NPs are not of predicted purity. It could be challenging to prepare AgNPs with the proper size, requiring a further step to prevent particle aggregation. In addition, during the synthesis procedure, too many poisonous and dangerous byproducts are excised out. The earlier research revealed that solid reductants such as borohydride bring about the formation of tiny particles, which are mono-dispersed to some extent. However, the manufacturing of larger particles may be accomplished by using low reductants such as citrate, having a decreased reduction rate. Thus, the size dispersion can be wide [58]. Chemical strategies employ cytochemical synthesis, laser ablation, lithography, electrochemical reduction, laser irradiation, sonolytic decomposition, thermal decomposition, and chemical reduction. Moreover, the dispersed and unstable prepared metal NPs may be stabilized using specific protective agents. This well-acquainted method is used to shield the NPs with the help of protecting agents that would bind onto or be absorbed in the surface of NPs to prevent accumulation [59].

For instance, the AgNPs may be reduced with the aid of using sodium borohydride and dodecanethiol for stabilized NPs that prevent their agglomeration in certain solvents [60]. It suggests that a minimal amendment in formulated parameters results in a valuable change in width, size distribution, average size, stability, and shape of the nanomaterial. Generally, polymers such as polymethyl methacrylate, polyvinyl pyrrolidone, polymethacrylic acid, polyethylene glycol, and others are used as stabilizers to manufacture gold NPs [61].

Moreover, a branched polymer methylene-bis-acrylamide aminoethyl piperazine having terminal dimethylamine groups (HPAMAM-N(CH$_3$)$_2$) has been utilized to obtain colloids of Ag and gold. The piperazine ring, tertiary amine group, and amide impart the branched shape to HPAMAM-N(CH$_3$)$_2$ and are, thus, very critical because of the extra stabilizing and reducing abilities they offer to NPs. NPs of metals may be obtained with peculiar properties such as the low and narrow distribution rates caused by increasing the molar ratio concentration of gold and silver [62]. AgNPs may be synthesized using two phases (aqueous/organic) that rely upon the isolation of reactants in non-mixing solvents. The reaction rate of the reducing agent and precursor of metal is determined by the boundary layer’s contact and the inter-phase delivery between the natural and aqueous phases. This response is facilitated by alkylammonium salt of quaternary nature [63]. This method gives us a specific and similar preparation of NPs, through the type of solvent used. The manufacturing of AgNPs may prove very expensive through this method, and also, the produced NPs cannot be isolated from the reaction mixture [64]. The synthesized particles through this method have benefits such as they quickly unfold in natural medium, form stable colloids in non-aqueous media, and catalyze reactions taking place in a non-polar solvent. Their practical applications are gaining tremendous interest, and attempts are being made to put together NPs under diverse chemo-physical environments. However, the solution formed in a non-polar solvent is rare [65]. Therefore, a reduction in Ag and gold is preferably accomplished with the aid of using photoreduction. In aqueous media, the photoreduction in DNA complex metal ions occurs, resulting in metallic solid NPs. The AgNPs organized through this technique have advanced properties if irradiated through UV [66].
Table 5. Synthesis of AgNPs using chemical method.

| Silver Salt | Reducing Agent | Capping Agent/Stabilizer | Ag Size (nm) | Reference |
|-------------|----------------|-------------------------|--------------|-----------|
| AgNO₃       | Hydrazine hydrate and sodium citrate | Sodium dodecyl sulfate | 10–20        | [67]      |
| AgNO₃       | D(+) -Glucose and NaOH | —                       | 8–24         | [68]      |
| AgNO₃       | Gallic acid | Gallic acid | 7–89         | [69]      |
| AgNO₃       | Hydrazine hydrate and citrate of sodium | Sodium dodecyl sulfate | 10–20        | [70]      |
| AgNO₃       | Sodium borohydride | Tri-sodium citrate | 5            | [71]      |
| AgNO₃       | Aniline | Ethyltrimethylammonium bromide | 10–30        | [72]      |
| AgNO₃       | Ethylene glycol | Poly vinyl pyrrolidone | 50–175       | [73]      |
| AgNO₃       | Ethylene glycol | Poly vinyl pyrrolidone | 8–10         | [74]      |
| AgNO₃       | NaOH | Polyanionic Na + poly(γ-glutamic acid) | 17.2 ± 3.4–37.3 ± 5.5 | [75] |
| AgNO₃       | Glucose | Poly vinyl pyrrolidone | 20–80        | [76]      |
| AgNO₃       | Poly(vinyl pyrrolidone) and gelatin | Glucose, fructose, lactose, and sucrose | 35 | [77] |
| AgNO₃       | D-Glucose | Carboxy methyl cellulose, NaOH | 5–15         | [78]      |
| AgNO₃       | Poly(ethylene glycol) | Poly(ethylene glycol) | 15–30        | [79]      |
| AgNO₃       | Poly(ethylene glycol) | —                       | 10–80        | [80]      |
| AgNO₃       | Ethylene glycol | Poly(vinyl pyrrolidone) | 17 ± 2       | [81]      |
| AgNO₃       | Ethylene glycol | —                       | 17–70        | [82]      |
| AgNO₃       | Alkali lignin(low sulfonate) | Alkali lignin(low sulfonate) | 7.3 ± 2.2–14.3 ± 1.8 | [83] |
| AgNO₃       | NaOH | Alkali lignin(low sulfonate) | 5–100        | [84]      |
| AgNO₃       | Sodium borohydride | —                       | 3.5–6        | [85]      |

3.3. Biological or Green Methods for the Synthesis of AgNPs

Biological green synthetic methods are the most convenient alternative to overcome the shortcomings associated with synthetic chemical methods. The greener approach is a simple, value-effective, dependable, and environment-friendly technique for synthesizing AgNPs; ease of solvent medium selection in the type of methods is another advantage (Figure 3). Particular attention has been given to the production of AgNPs of defined size and shape. Diverse biological systems such as plant extracts (Table 6) and microorganisms such as fungi (Table 7), bacteria (Table 8), and small biomolecules such as vitamins and amino acids are used as an alternative source of reducing and capping agents. For instance, the preparation of AgNPs using starch as a coating mediator may act as a reducing agent (β-D-glucose in a slightly heated assembly) [86]. An aqueous starch solution is used as a solvent to prepare AgNPs to avoid organic solvents. Various types of bacteria such as Pseudomonas stutzeri, Lactobacillus strains, Bacillus licheniformis, Escherichia coli, and Brevibacterium casei, fungi such as Fusarium oxysporum and Ganoderma neo-japonicum Imazeki, and plant extracts (Allophylus cobbe, Artemisia princeps, and Typha angustifolia) have been utilized for the synthesis of AgNPs [87]. A reported study shows that a considerable yield of AgNPs may be prepared using an aqueous silver ion (Ag⁺) solution with Bacillus licheniformis used as the stabilizing agent. The fabrication of stable AgNPs with the help of a biogenic approach using microorganisms is advantageous over different techniques because the organisms used are nonpathogenic [88]. Other biomolecules, including biopolymers, starch, fibrinolytic enzyme, and amino acids, are also employed for fabricating AgNPs.
The green synthesis uses extracts from the different plants as a source of capping and reducing agents in the preparation of AgNPs; it is suggested that the bio-molecules, especially secondary metabolites in those extracts, could reduce the Ag ions. They consist of vitamins, polysaccharides, amino acids, proteins, enzymes, polyphenolics, flavonoids, and other secondary metabolites [89,90]. Likewise, proteins found in the plant extracts also play an essential role as a reductant of the Ag\(^{+}\) and as a size controlling agent for the formulation of AgNPs. Functional groups such as carboxylic (COOH) found in glutamine and aspartic residues and OH group of the tyrosine residues are considered responsible for stabilizing Ag ion and producing small nanoplates of Ag with a little polydispersity [91].

Different plant extracts such as alfalfa, lemongrass soup, geranium leaves, *capsicum annum*, and aqueous geranium extract have been used as bio-reductants to prepare NPs [92–95]. The proteins found in mushrooms can act as a stabilizing agent to reduce Ag ions to obtain NPs of unique shape and a size of approximately 30.6 nm [93]. Glutathione has been extensively utilized as a stabilizing agent to prepare water-soluble AgNPs with many medical side applications [96]. According to the Langmuir Blodgett approach, AgNPs may be synthesized using vitamin E as a reducing agent [97–99]. Oleic acid has also been used for the synthesis of biodegradable and green AgNPs [100].

Various microorganisms are employed to expand AgNPs extra-cellularly or intra-cellularly [101,102]. For example, the nanocrystals that contain Ag having altered compositions are prepared using *Pseudomonas stutzeri* bacterium [103]. Fungal species such as *Fusarium oxyporum*, *Chrysosporium phanerochaete*, and *Trichoderma viride* also reduce (Ag\(^{+}\)) during AgNPs’ synthesis [104]. Furthermore, Ag ion reduction can also be accomplished by *Klebsiella pneumonia*, *Enterobacter cloacae*, and *Escherichia coli* [105].

AgNPs synthesized biologically have characteristic features such as hydrophilic nature, large surface area, and improved stability. This synthesis technique has quite a few benefits as it is economical, simple, regenerable, and needs a small amount of energy compared to particles synthesized by chemical techniques. The AgNP macrophages have been obtained, and their morphology suggests their instability with intermittent rod-like and spherical NPs produced in the diameter extent of 5–40 nm [106,107]. These biosynthesized nano-size particles were studied within the peri-plasmic part of the bacteriological cell among the interior and exterior cellular membranes.

The lactobacillus species have also been used as a source of capping and reducing agents. Lactic acid bacteria can formulate the AgNPs, and both the particle allocation and localization within the cell are dependent on the type of lactobacillus species. Likewise, the thickness of biosynthesized AgNPs produced in this technique varied with the types of lactobacillus. At ambient conditions of temperature and pressure, the reduction in metal
ions with the help of the biological method is much faster than the other techniques [108]. Likewise, Zuorro, A. et al. successfully synthesized AgNPs from bilberry and red currant waste as a source of reducing and stabilizing agents [109].

Similarly, AgNPs were produced in an economical and eco-friendly procedure where phenolic extracts from agro-industrial wastes (bilberry and spent coffee grounds) were used as reducing agents [110]. The biological activity of AgNPs relies upon their morphology and structure managed through the size and shape of the particles. Although AgNPs with unique form and size ranges have been synthesized in different studies, they still have certain shortcomings. A study utilized an extra potent reducing agent such as sodium borohydride (NaBH4) to synthesize uniform-sized silver colloids [108,111]. Though the green synthesis approach has benefits over chemical synthesis, the number of product AgNPs using this approach could be deficient. The shape, size, and distribution of the produced NPs could be optimized by controlling the synthesis techniques, reducing and stabilizing factors, and parameters such as temperature and pH [112].

Table 6. Biological method of synthesis of silver NPs using plants extracts as a reducing agent.

| Silver Salt | Plant Origin | Shape | Silver Size (nm) | Reference |
|-------------|--------------|-------|-----------------|-----------|
| AgNO$_3$    | Pinus, Diospyros kaki Ginkgo biloba magnolia and Platanus | —     | 15–500          | [112]     |
| AgNO$_3$    | Artocarpus heterophyllus lam | Irregular | 10.78           | [113]     |
| AgNO$_3$    | Prunus yedoensis | Spherical and oval | 20–70 | [114]     |
| AgNO$_3$    | Zingiber officinale | —     | 10–20           | [115]     |
| AgNO$_3$    | Morinda citrifolia | Spherical | 30–55          | [116]     |
| AgNO$_3$    | Bunium persicum | Spherical | 20–50           | [117]     |
| AgNO$_3$    | Justicia Adhatoda | Spherical | 25              | [118]     |
| AgNO$_3$    | Adenium obesum | Spherical | 10–30          | [119]     |
| AgNO$_3$    | Coffee arabica | Spherical and ellipsoidal | 20–30     | [120]     |
| AgNO$_3$    | Vigna radiata | Spherical and oval | 5–30          | [121]     |
| AgNO$_3$    | Jatropha curcas | Spherical | 10–20          | [121]     |
| AgNO$_3$    | Emblica officinalis | —     | 10–20           | [122]     |
| AgNO$_3$    | Lantana camara | Spherical | 14–27           | [123]     |
| AgNO$_3$    | Sesuvium portulacastrum L. | Spherical | 5–20       | [124]     |
| AgNO$_3$    | Mentha piperita | Spherical | 90             | [125]     |
| AgNO$_3$    | Tribulus terrestris L. | Spherical | 16–28         | [126]     |
| AgNO$_3$    | Nyctanthes arbor-tristis L. | Spherical | 50–80       | [127]     |
| AgNO$_3$    | Azadirachta indica | Spherical | 50–100        | [128]     |
| AgNO$_3$    | Pelargonium sidoides DC. | Spherical | 16–40        | [129]     |
| AgNO$_3$    | Vigna unguiculata | Spherical | 24.35      | [130]     |
| AgNO$_3$    | Cinnamomum camphora | Spherical | 55–80        | [131]     |
| AgNO$_3$    | Aloe barbadensis miller | Spherical | 15.2 ± 4.2 | [132]     |
| AgNO$_3$    | Amaranthus retroflexus | Spherical | 10–32        | [133]     |
### Table 7. Synthesis of AgNPs using fungus.

| Silver Salt | Fungus | Shape     | Silver Size (nm) | Reference       |
|-------------|--------|-----------|------------------|-----------------|
| AgNO$_3$    | Verticillium dahliae Kleb | —         | 25 ± 12          | [134,135]       |
| AgNO$_3$    | Fusarium oxysporum | Spherical  | 5–15             | [136]           |
| AgNO$_3$    | Aspergillus flavus | —         | 8.92             | [137]           |
| AgNO$_3$    | Cryphonectria sp. | —         | 30–70            | [138]           |
| AgNO$_3$    | Pestalotopsis microspore | Spherical | 5–25             | [139]           |
| AgNO$_3$    | Phanerochaete chrysosporium | Pyramidal | 50–200           | [140]           |
| AgNO$_3$    | Cochliobolus lunatus | Spherical  | 3–21             | [141]           |
| AgNO$_3$    | Aspergillus terreus and Penicillium expansum | Spherical | 6–100 and 14–76 | [142]           |
| AgNO$_3$    | Amylomyces rouxii | Spherical  | 5–27             | [143]           |
| AgNO$_3$    | Aspergillus fumigatus | Spherical | 17 ± 5.9         | [144]           |
| AgNO$_3$    | Aspergillus niger | Spherical  | 3–30             | [144]           |
| AgNO$_3$    | Alternaria alternate | Spherical | 20–60            | [145]           |
| AgNO$_3$    | Aspergillus fumigatus | Spherical | 5–25             | [146]           |
| AgNO$_3$    | Rhizopus stolonifer | Spherical | 9.47             | [147]           |
| AgNO$_3$    | Cladosporium sphaerospermum | Spherical | 15.1 ± 1.0      | [148]           |

### Table 8. Synthesis of AgNPs using bacteria.

| Silver Salt | Microorganisms | Shape     | Silver Size (nm) | Reference       |
|-------------|----------------|-----------|------------------|-----------------|
| AgNO$_3$    | Bacillus licheniformis | Spherical | 18–63            | [149]           |
| AgNO$_3$    | Klebsiella pneumonia | —         | 28–122           | [150]           |
| AgNO$_3$    | Pseudomonas antarctica, Pseudomonas proteolytic, Pseudomonas meridiana | Spherical | 6–13             | [151]           |
| AgNO$_3$    | Bacillus subtilis | Spherical  | 5–60             | [152]           |
| AgNO$_3$    | Staphylococcus aureus | —         | 160–180          | [153]           |
| AgNO$_3$    | Klebsiella pneumonia | Spherical | 1–6              | [154,155]       |
| AgNO$_3$    | Nocardiosis sp. MBRC-1 | Spherical | 45 ± 0.15        | [156]           |
| AgNO$_3$    | Serratia nematodiphila | Spherical | 10–31            | [157]           |
| AgNO$_3$    | Bacillus subtilis | Spherical  | 20–50            | [158]           |
| AgNO$_3$    | Deinococcus radiodurans | Spherical | 4–50             | [159]           |
| AgNO$_3$    | Bacillus pumilus | Spherical  | 77–92            | [160]           |
| AgNO$_3$    | Gluconacetobacter xylinus | Spherical | 40–100           | [161]           |

### 3.4. Photochemical Method for AgNP Synthesis

There are two kinds of strategies used for photochemical synthesis: photo-physical (top to bottom) and photochemical (bottom to up). The first technique utilizes metals in their metallic form, and the second one utilizes their ionic precursor. The direct photoreduction technique is also used for the synthesis of NPs of various metals. Photosensitization is used to prepare AgNPs, wherein metallic ion reduction occurs with excited species generated photochemically [162]. Various light sources such as blue, UV, white, orange, green, and cyan allows the procedure of direct photoreduction in silver nitrate in the presence of sodium citrate at room temperature [163,164]. The specific optical properties related to the size and shape of the NPs are because of the various light sources. Stable AgNPs may
be synthesized via a simple and reproducible UV photoactivation technique in an aqueous Triton X-100 medium [165]. The molecules of Triton X-100 play a double role similar to NPs’ stabilizers through capping action and as a reducing agent. Likewise, the dispersion controlled technique wherein the surfactant solution allows the NPs to grow and recover the NPs’ size distribution. Another study revealed the successful preparation of AgNPs, while an aqueous alkali solution of silver nitrate was treated with carboxymethylated chitosan under UV light irradiation. The chitosan derivative, carboxymethylated chitosan (CMCTS), is biocompatible, water-soluble, and serves as a reducing agent for Ag+ and the stabilizing agent for NPs of silver in the thickness range of 2–8 nm [165]. The relevant factors of photochemical synthesis techniques are (i) offer photo-induced processing in a disinfected manner, higher accessibility, and better resolution of use; (ii) the satisfactory generation of reducing agent and manufacturing of NPs with the aid of using the photo irradiation; (iii) remarkable flexibility. The photochemical synthesis permits us to formulate the NPs in a unique environment such as emulsion, surfactant micelles, polymer films, cells, and glasses [166].

4. Biological Applications of AgNPs

Due to their different properties, AgNPs have been broadly utilized in household utensils, food storage, and health care industry, environmental, and biomedical applications. The present review encompasses a discussion on different biological properties of the AgNPs, emphasizing anti-inflammatory, anticancer, and anti-angiogenic properties and the antimicrobial potential of AgNPs against different classes of microorganism, viz., bacteria, fungi, and viruses.

4.1. Antibacterial Potency of AgNPs

AgNPs could help overcome the bacterial resistance against antibiotics in the era of antibiotic resistance by replacing antibiotics as alternative antibacterial agents. A reported research study by Haque et al. [167] validated the antimicrobial activity of AgNPs against Escherichia coli, leading to cell death because of the accumulation of AgNPs in the cell wall. The study suggests that the extent of AgNPs’ antibacterial activity largely depends on their size and shape [168,169]. In another study, the AgNPs prepared using different saccharides showed potent broad-spectrum bactericidal activity against Gram-positive and Gram-negative bacteria. The noticeable outcome of the study was that the prepared AgNPs were active against multi-resistant bacterial strains such as Staphylococcus aureus [169].

Additionally, the efficiency of certain antibiotics could be improved in the presence of AgNPs; for instance, the potential of amoxicillin, penicillin G, and others against E. coli and Staphylococcus aureus was observed to be increased in the presence of AgNPs in a study. Another study demonstrated the efficiency of AgNPs produced through green synthesis against multiple antibiotic-resistant bacterial strains, including Staphylococcus aureus, Staphylococcus epidermidis, Streptococcus pyogenes, Klebsiella pneumoniae, and Salmonella typhi [170]. Scientists worldwide are trying to develop new drugs using nanotechnology to decrease antibiotic resistance [171]. Nanotechnology has produced new aspects to treat infections via minute-scale resources and overcome the side effects of available drugs by using green methods [172]. The AgNPs are identified for their excessive antimicrobial/bactericidal activities, and this inhibitory effect can be used to remedy contagious illnesses better [173]. Ag is used as an antimicrobial agent in burns and wounds because microbes can be efficiently eliminated due to the substantial antimicrobial effect of Ag ions. Biofilms are concerned with improving ocular-related infectious illnesses, together with microbial keratitis, which has occurred because of antimicrobial resistance [174]. Abdullah et al. [100] also showed the antimicrobial activity of AgNPs against Staphylococcus epidermidis and Pseudomonas aeruginosa. Likewise, AgNPs produced using guava leaf extract showed better antibacterial potential against E. coli than their chemically synthesized counterpart. The adsorption of bioactive molecules in the extract is considered present at the surface of the NPs and responsible for the more significant antibacterial activity [175].
AgNPs produced by *Cryphonectria* sp. Showed potent antibacterial activity against numerous human pathogenic bacteria, including *S. aureus*, *Salmonella typhi*, *E. coli*, and *Candida albicans*. The mechanism of AgNP-induced cell death (Figure 4), as observed in *E. coli*, is through the leakage of reducing sugars and proteins.

Furthermore, AgNPs can destroy bacterial cell membrane permeability by generating pits and gaps, leading to bacterial cell death [176]. Besinis et al. [177,178] compared the potency of various nanomaterials, including AgNPs, silver, and titanium dioxide of disinfectant chlorhexidine against *Streptococcus mutans*. Among the tested nanomaterials, AgNPs had the most potent antibacterial activity. Agnihotri et al. [179] studied AgNPs’ bactericidal action mechanisms using AgNPs immobilized on an amine-functionalized silica surface. They discovered contact killing is the fundamental bactericidal mechanism, and surface-immobilized NPs display more efficacy than colloidal AgNPs. Khurana et al. [180] investigated the antimicrobial properties of silver based on its physical and surface properties against *S. aureus, B. megaterium, P. vulgaris*, and *S. sonnei*. The enhancement of antibacterial action was observed with particles having a hydrodynamic size of 59 nm compared to 83 nm. The efficacy of the AgNPs relies upon numerous special characteristics such as shape, size, and types of compounds used as reductants and exposure time. These factors have an extensive influence on their bio-medical efficacies [181]. The bio-medical efficacy of AgNPs additionally relies on the sort of microorganisms or plant extract used as stabilizer/reducing agent. As reported earlier, AgNPs showed remarkable antibacterial activities as measured through minimum inhibitory concentration and minimal bactericidal concentration towards the tested bacteria, which is why it is used on a large scale as a bactericidal agent [182].

![Figure 4. Antibacterial mechanism of AgNPs](image)

### 4.2. Antifungal Activity of AgNPs

Fungal infections are commonly present in immunologically suppressed patients. Because of the restricted number of available antifungal drugs, it is troublesome to address all fungal infections. Therefore, it is desperately required to develop biocompatible, non-toxic, and environmentally friendly antifungal agents. AgNPs have been reported to possess significant antifungal activity against several fungal species, including *C. albicans*, *C. tropicollis*, *C. glabrata*, *C. krusei*, *C. parapsilosis*, and *T. mentagrophytes*. The proposed mechanism of action disrupts the fungal envelop arrangement, thereby causing damage to the cells [184]. Similarly, an appreciable antifungal activity of AgNPs was demonstrated by Esteban-Tejeda et al. [185]. Biologically synthesized AgNPs have reportedly potent antifungal activity when combined with fluconazole against *Phoma lomerate, Candida glabrata, Phoma herbarum, Fusarium semitectum, Trichoderma sp.*, and *Candida albicans* [183]. Likewise, in another study, antifungal activity of AgNP’s has been reported against *Alternaria alternata, Macrophomina phaseolina, Rhizoctonia solani, Sclerotinia sclerotiorum, Botrytis cinerea, and*
Curvularia lunata [186,187]. Similarly, the AgNPs synthesized by Bacillus species displayed increased antifungal activity against the plant pathogenic fungus Fusarium oxysporum [188]. Carbon nanoscrolls composed of AgNPs and graphene oxides have shown intense antifungal activity against Candida albicans and Candida tropical. AgNPs produced through green synthesis in another study strongly suppressed conidial germination and displayed potent antifungal activity against Bipolaris sorokiniana [189]. AgNPs also inhibited fungal species such as Aspergillus fumigatus, Penicillium brevicompactum, Chaetomium globosum, Cladosporium cladosporoides, Mortierella alpine, and Stachybotrys chartarum [190].

4.3. Antiviral Activity of AgNPs

Viral infections are a common global issue, and it is worsening day by day. Therefore, the development of antiviral agents is a necessary demand of the day. AgNPs can play a vital role due to their antiviral potential and can inhibit the growth and viability of viruses [191–193]. AgNPs showed excellent inhibitory activity against hepatitis B virus (HBV) and human immunodeficiency virus (HIV), as concluded by a reported study [194]. However, the antiviral mechanism of AgNPs remains unknown [195,196]. Lara et al. [197] suggested the primary mechanistic approach on anti-HIV action concerning viral replication taking place at an early stage using polyvinyl pyrrolidone-coated AgNPs that strongly inhibited the transmission of cell-free and cell-associated isolates of HIV-1 [197]. Reported research related to the antiviral action of AgNPs has proven that it can inhibit the viability of viruses; however, the precise mechanism remains unclear [198]. It is also reported that the use of AgNPs considerably prevented the progression of influenza virus in Madin–Darby canine kidney cells (mammalian cell lines) and decreased viral titer in lung tissue [199]. Growth of types 1 and 2 herpes simplex virus and type 3 human parainfluenza virus in the presence of green AgNPs was successfully inhibited [200]. In another study, treatment of AgNPs for 24 h extensively decreased the concentration of virus, prevalence of infection, and severity of bean yellow mosaic virus disease [201].

4.4. Anti-Inflammatory Activity of AgNPs

Our body needs a response against the foreign pathogens or particles, which have been triumph over by immunological reactions in the form of elevated levels of pro-inflammatory cytokines, released through the activation of the immune system, and chemotactic materials including complement factors, interleukin-1 (IL-1), TNF-α, and TGF-β [202–204]. To conquer and stop inflammation for that motive, we require a sufficient amount of anti-inflammatory substances and agents. Among numerous anti-inflammatory agents, AgNPs have performed an essential function as an anti-inflammatory agent. AgNPs are considered an excellent antimicrobial agent; however, their anti-inflammatory responses are still limited. A reported study on the anti-inflammatory action of AgNPs has discovered that it notably reduces the colonic inflammation in rats treated intra-colonially (4 mg/kg) or orally (40 mg/kg) with nanocrystalline silver (NPI 32101) [205,206]. A study carried out by Tian et al. [207] states that in the early stages of wound healing, AgNPs could significantly slow down the production of inflammatory markers by suppressing the anti-inflammatory activities [208]. Biologically synthesized AgNPs can inhibit UV-B-induced cytokine production in HaCaT cells and reduce paw tissues’ edema and cytokine levels [209].

4.5. Anti-Angiogenic Activity of AgNPs

Inflammatory and ischemic diseases are caused due to pathological angiogenesis and certain types of cancers [210]. Studies are on the way to seek anti-angiogenic substances to address angiogenic ailments better. Many synthetic anti-angiogenic substances are available, but natural pro- and anti-angiogenic elements that would contribute an effective physiological strategy for treating every type of antigenic ailments are still needed. Recently reported in vitro and in vivo studies have suggested their anticancer and anti-angiogenic properties [211]. Chan et al. [212] have recommended using biologically synthesized AgNPs in the bovine retinal endothelial cells (BRECs) model and shown significant inhibition
of proliferation and migration in BRECs. Their results revealed that AgNPs strongly inhibited the proliferation and migration in BRECs after 24 h treatment and exhibited anti-angiogenic properties. The mechanism of inhibiting vascular endothelial growth factor (VEGF) introduced an angiogenic process via caspase-3 and DNA fragmentation activation. Reported studies show that AgNPs strongly inhibit the VEGF-induced PI3K/Akt pathway in BRECs [213]. Tavakolpour and Karami [214] also reported the anti-angiogenic property of AgNPs. AgNPs inhibited VEGF-induced angiogenic activity via blocking the formation of new blood microvessels and inactivation of PI3K/Akt in BRECs. Fibroblast growth factor-induced angiogenesis can also be inhibited using AgNPs [215].

4.6. Anticancer Activity of AgNPs

Cancer is a major life-threatening illness, and one out of three individuals can develop cancer in their lifetime. Although for the therapy of various types of cancer, different chemotherapeutical agents are presently offered with numerous side effects, and specifically, the administration of chemotherapeutic agents intravenously is an insufficient method [216]. Consequently, it is necessary and a point of interest for researchers to formulate nanomaterial with no side effects and target the desired cells or tissues with accuracy. The anticancer activities both in in vitro and in vivo model systems have been reported [216]. Quan et al., in their study, demonstrated that cancer cell death is dependent on the concentration of AgNPs [217].

Moreover, synergistic results on cell death using uracil phosphoribosyl enzyme (UPRT)-expressing cells and non-UPRT-expressing cells in the presence of fluorouracil and the induction of apoptosis and sensitization of cancer cells by AgNPs were studied. They showed anticancer properties once coated with starch as studied in healthy human lungs fibroblast cells (IMR-90) and glioblastoma cells (U251). Changes in cell morphology, reduced metabolic activity, cell viability, and accumulated reactive oxygen species (ROS) were induced by AgNPs [218].

Song et al. [219] prepared multifunctional silver-embedded magnetic NPs; the silica-encapsulated magnetic NPs produce surface-enhanced solid Raman scattering signals to target breast cancer cells and floating leukemia cells [220]. A study showed developed carrier molecules such as chitosan to deliver silver to the cancer cells rather than using AgNPs directly. Likewise, Ullah et al. demonstrated that at low concentrations, chitosan-based nano-carrier delivery of AgNPs could induce apoptosis [221]. Similarly, two individual studies have shown that chitosan-coated silver nano-triangles improve the cell mortality rate [222] and possess significant cytotoxic activity in acute myeloid leukemia cells [223]. AgNPs using bacterial and fungal extract demonstrated significant cytotoxicity in human carcinoma cells [224,225].

Plant extract-mediated synthesis of AgNPs has shown selective cell-specific toxicity of cancer cells in human lungs [226]. Another reported study reveals that targeted delivery could be a crucial method for cancer treatment. To deal with this issue, Locatelli et al. [227] developed multifunctional nanocomposites comprising compound NPs (PNPs) and AgNPs. PNPs conjugated with a chlorotoxin showed a non-linear dose–effect relationship, whereas the toxicity of chlorotoxin remained stable. Biologically synthesized AgNPs exhibited vital toxicity in cancer cells (MCF7 and T47D) by higher endocytic activity than the regular breast cell line (MCF10-A) [228].

5. Water Purification and Treatment

Purification of drinking water is a necessity of the era, as the water from different sources may potentially be a source of toxic levels of microorganisms, heavy metals, and organic molecules [229]. Strategies such as coagulation, filtration, settlement, chlorination, and many different chemical approaches purify water for consumption in the household [230]. AgNPs with higher stability, cost-effectiveness, and with a controllable release rate have been successfully employed for the removal of inorganic anions [231], heavy metals [232], organic pollutants [233], and bacteria [234] from water and have shown promising
potential for application in water and wastewater treatment. In recent years, their use for water disinfection has especially increased because of their high toxicity to microorganisms. However, direct application of AgNPs could lead to their aggregation in aqueous media leading to a gradual reduction in their efficiency in long-term use [235]. In this context, AgNPs attached to filter materials could be a better alternative to minimize the aggregation problem and be cost-effective with efficient antibacterial potential, as exhibited in different studies [236]. The sheets where AgNPs are deposited on the cellulose fibers have shown significant antibacterial properties against \( E. \text{coli} \). Moreover, Ag\(^+\)'s loss from such sheets does not exceed its standard range in drinking water (0.1 ppm) set by the environmental protection agency and the WHO [237].

Moreover, the effective usage of Ag NPs embedded on ceramic materials/membranes for the disinfection and treatment of water for household use at the point of use has also increased in the last two decades [238]. Yet another use of AgNPs in water treatment is to prevent fouling of the membrane filters used in water treatment systems [239,240].

5.1. The Catalytic Efficiency of AgNPs for Water Pollution Monitoring Using Different Treatment Methods

The catalytic application of NPs for water purification may be summarized for three fundamental varieties of contaminants: halogenated organics that include pesticides, heavy metals, and microorganisms [241]. By changing the characteristics of surface functionalization of AgNPs and selecting specific ligands, the particles can be made selective to specific analytes and increase their sensitivity. In their study, Que, Z. G. et al. reported the successful synthesis of AgNPs supported on zirconia–ceria to improve the Ag dispersion on the catalyst support and inhibit its sintering during the reaction and used the synthesized NPs for the catalytic wet air oxidation of refractory organic compounds [242]. Of the various types of wastewater, printing and dye wastewater represent the most difficult problem due to their complex components [243]. The large amounts of non-degradable oil and toxic 4-nitrophenol dissolved in wastewater pose an urgent challenge [244]. AgNPs have a role in the catalytic degradation of 4-nitrophenol [245] due to the high specific surface, abundantly exposed low-coordination sites, and low cost. However, due to the surface’s high energy, there is a tendency for decreased catalytic activity over time. In addition, the powders are very difficult to recover from the water, which leads to possible secondary contamination. Therefore, immobilization of AgNP in porous oil absorbent materials has been observed as an effective approach to improving the recyclability of AgNP [246].

In another study, multifunctional 3D filter cotton was successfully manufactured by simply immobilizing PDA and AgNP on the surface. The high catalytic degradation performance of the processed 3D filter cotton can be used to degrade water-soluble 4-nitrophenol and has excellent oil/water separation efficiency and recyclability [247]. Likewise, green synthesis of highly stable AgNPs and their effective role as catalyst, photocatalyst, and antimicrobial agent has been reported in a study to treat wastewater [248].

The increasing integration of AgNPs in environmental applications, including controlling and treating water pollution, raises concern about their effects on the environment. Grafting AgNP onto specifically selected polymers represents a potential solution to overcoming environmental safety concerns and the coalescence of nanoparticles. AgNP–cellulosic hybrids have the dual advantages of being easily made with recycled material, having low cost and potential reuse, and being environmentally friendly when properly designed to control and treat water pollution [249].

Manivannan et al. [250] developed AgNPs embedded in an amine-functionalized silicate sol-gel matrix, produced using a different combination of silicate, surfactant, and cyclodextrin. The selective detection of Hg (II) ions by the AgNP-based sensors in 500 mM environmentally relevant metal ions was verified using spectral and colorimetric methods. Another important characteristic of AgNPs is their potential as photocatalysts. Sharma et al. [251] investigated the same behavior for their AgNPs. They developed a simple, label-free, inexpensive, portable, selective, and sensitive colorimetric sensor based on thiol-modified chitosan AgNPs for the real-time detection of toxic Hg (II) ions in water.
Melinte et al. [252] prepared several photocatalysts primarily based on Ag, Au, or Au-Ag nanoparticles supported on photo cross-linked natural, and those hybrid structures allowed the photocatalytic degradation of polymers 4-nitroaniline. Roy et al. [253] studied the photocatalytic degradation of methylene blue dye in the presence of biogenic AgNPs synthesized using yeast (Saccharomyces cerevisiae) extract. To sum up, several documented reports on the catalytic degradation efficacy of AgNPs show the capability of their potential use in water treatment systems. However, while designing a water treatment system based on AgNPs, their potential release and possible secondary water contamination should be considered.

5.2. Role of the Antibacterial and Antifungal Potency of AgNPs in Water Treatment

The documented antimicrobial potency of AgNPs makes them perfect candidates for their use in water treatment and disinfection. The antimicrobial activity of AgNPs as proposed in the literature is because of any of these three actions: (1) alteration of membrane properties; (2) damage to DNA/RNA or proteins; (3) release of Ag (I) in the cell cytoplasm. The antimicrobial potential of AgNPs is why several AgNP-based products are used in disinfecting water and as water filters to avoid pathogenic bacteria and viruses. However, it was reported [254] that applying AgNPs directly to water might result in their bioaccumulation in fish cultures. Therefore, toxicity studies might be required to determine aquaculture uses. Another study [255] has evaluated equipment-covered filters with AgNPs to reduce fungal growth in aquacultures; the use of AgNPs in filters was found significantly effective in preventing fungal infections without observing side effects. The antimicrobial activity of AgNPs is closely related to the release of Ag+ ions in the aquatic environment [255].

Similarly, Deshmukh, S.P et al. developed AgNP-based biofilters for disinfection of water by eliminating ammonia and other contaminants, including microorganisms from water [256]. In another study [256], nanotubes were elaborated with carbon, and cyclodextrin nanotubes impregnated with AgNPs were prepared to purify water samples in which E. coli and V. cholerae were detected. The reported studies from the literature safely conclude the potential use of AgNPs as water disinfectants for three major reasons: (a) its exceedingly high antimicrobial activity, (b) stability and slow-release, and (c) potential of large-scale production through green synthesis.

6. Potential Hazardous Effects of AgNPs

As we acknowledge the diverse applications of AgNPs and their composites, they have some negative impacts. AgNPs are utilized in digital devices, toys, cleansing, scientific appliances, and the food industry [257]. They could prove a potential threat of toxicity to aquatic organisms, and the extensive use of AgNPs as antimicrobial agents and disinfectants could enhance bacterial resistance [258]. The maximum limit of AgNPs’ additives in drinking water is 100 µg/l; however, it is expected that the dissolved silver/nanosilver levels rise to toxic levels because of the release of nano-size silver from AgNPs. The AgNP-caused toxicity is higher for aquatic species than terrestrial animals and humans [259]. Environmental toxicity is associated with the consecutive release of nano-size silver, and their effect on marine life is because of the distribution and emission of the products [260]. The toxicity of the AgNPs, as described by a literature review, is due to surface phenomena such as aggregation, sulfidation, and phase transformation in aquatic organisms. It also reveals silver toxicity for some terrestrial, aquatic plants, fungi, algae, human cells, pores, and skin, and other vertebrates [261]. Another study states that AgNPs, because of the accumulation of particles in the cell medium, cellular uptakes, localization inside the cell, and its discharge and release in the lung cells, are responsible for the toxicity of AgNPs [262]. Concluding studies about the determination of the toxicity limit concentration of AgNPs are inadequate as the extent of their potential toxicity depends on many factors, including the concentration of AgNPs and their size, shape, and surface area. Moreover, their sources, route of entry to the body, methods of
toxicological assessment (in vitro, in vivo, in silico), and dose units (ppm, mass per volume, or mass per unit of NPs) may significantly alter and, hence, make it difficult to define the exact toxicity range of AgNPs. Nonetheless, AgNPs have more potential toxicity compared to Ag⁺ ions [263].

7. Future Perspectives and Conclusions

This review article summarizes the classification, strategies of synthesis, and applications of AgNPs in depth. The review offers a ready reference source in a single place for a detailed discussion about different characteristics and types, synthesis strategies, biological properties, medicinal applications, the role in water treatment and purification of AgNPs, and the potential hazardous effects associated with them. Different strategies such as physical, chemical, and biological approaches widely used for AgNPs’ synthesis have been discussed in detail. As described and stated in the article, the preferred synthesis methodology is green synthesis because of its environmental compatibility, low cost, simplicity of the process, re-generation, and need for a small amount of energy. In nano-chemistry, particle size is the most critical factor, and it has been observed that using different plants, different size particles of the same metal could be obtained, clearly indicating that different plants have different capabilities of reducing the metal ions. However, the sole factor ascertained here is that the NPs’ quantity is lower through green synthesis. There ought to be a side effects assessment, which is also a problem that requires intellectual attention.

AgNPs, because of their considerable antimicrobial potential, are employed for the treatment of wastewater and household water. The review covers the different strategies of AgNPs’ use for water purification and disinfection. The documented biological potentials of AgNPs discussed in the review encourage scientists to utilize different plants as a source of reducing agents to obtain the required particle size and shape and with varying medicinal applications.

Author Contributions: N.N.; Conceptualization, N.N.; methodology and writing—original draft preparation, M.I. and S.N.; validation, I.Z.; formal analysis, A.K., F.U. and J.B.; investigation, A.K. and A.W.K.; resources, M.Z.; data curation, N.P.; writing—original draft preparation, I.Z. and N.N.; writing—review and editing, M.Z. and F.A.K.; visualization, I.Z.; supervision, M.Z.; project administration, M.Z., A.K. and N.P.; funding acquisition, M.Z. All authors have read and agreed to the published version of the manuscript.

Funding: This research was funded by project number T190087MIMV and the European Commission, MLTKT19481R “Identifying best available technologies for decentralized wastewater treatment and resource recovery for India” and SLTKT20427 “Sewage sludge treatment from heavy metals, emerging pollutants and recovery of metals by fungi,” and by projects KIK 15392 and 15401 by the European Commission.

Institutional Review Board Statement: Not applicable.

Informed Consent Statement: Not applicable.

Data Availability Statement: All the data is presented in this paper. No data is there in any other repository.

Conflicts of Interest: The authors declare no conflict of interest. The funders had no role in the study’s design, collection, analyses, and interpretation of data, manuscript writing, or decision to publish the results.
4. El-Dein, M.M.N.; Baka, Z.A.M.; Abou-Dboba, M.I.; El-Sayed, A.K.; El-Zahed, M.M. Extracellular biosynthesis, optimization, characterization and antimicrobial potential of Escherichia coli d8 silver nanoparticles. J. Microbiol. Biotechnol. Food Sci. 2021, 10, 648–656. [CrossRef]

5. Ali, A.; Ahmed, T.; Wu, W.; Hossain, A.; Hafeez, R.; Masum, M.I.; Wang, Y.; An, Q.; Sun, G.; Li, B. Advancements in plant and microbe-based synthesis of metallic nanoparticles and their antimicrobial activity against plant pathogens. Nanomaterials 2020, 10, 1146. [CrossRef]

6. Brycki, B.; Szulc, A.; Babkova, M. Synthesis of Silver Nanoparticles with Gemini Surfactants as Efficient Capping and Stabilizing Agents. Appl. Sci. 2021, 11, 154. [CrossRef]

7. Narayanan, V.; Alam, M.; Ahmad, N.; Balakrishnan, S.B.; Ganesan, V.; Shamugamundaram, E.; Rajagopal, B.; Thambusamy, S. Electrospun poly (vinyl alcohol) nanofibers incorporating caffeic acid/cyclodextrins through the supramolecular assembly for antibacterial activity. Spectrochim. Acta Part A Mol. Biomol. Spectrosc. 2021, 249, 119308. [CrossRef]

8. Yasmin, S.; Nouren, S.; Bhatti, H.N.; Iqbal, D.N.; Ifikhar, S.; Majeed, R.; Rizvi, H. Green synthesis, characterization and photocatalytic applications of silver nanoparticles using Diospyros lotus. Green Process. Synth. 2020, 9, 87–96. [CrossRef]

9. Arteaga-Díaz, S.J.; Meramo-Hurtado, S.I.; León-Pulido, J.; Zuoorro, A.; González-Delgado, A.D. Environmental assessment of large scale production of magnetite (Fe₃O₄) nanoparticles via coprecipitation. Appl. Sci. 2019, 9, 1682. [CrossRef]

10. Amer, M.W.; Awwad, A.M. Green synthesis of copper nanoparticles by Citrus limon fruits extract, characterization and antibacterial activity. Chem. Int. 2021, 7, 1–8.

11. Liu, X.; Liao, C.; Lin, L.; Gao, H.; Zhou, J.; Feng, Z.; Lin, Z. Research progress in the environmental application of magnesium hydroxide nanomaterials. Surf. Interfaces 2020, 21, 100701. [CrossRef]

12. El-Sayed, M.E. Nanoabsorbers for water and wastewater remediation. Sci. Total Environ. 2020, 739, 139903. [CrossRef]

13. Das, D.; Roy, A. Synthesis of diameter controlled multilayer carbon nanotubes by microwave plasma-CVD on low-temperature and chemically processed Fe nanoparticle catalysts. Appl. Surf. Sci. 2020, 515, 146043. [CrossRef]

14. Deng, J.; Ding, Q.M.; Jia, M.X.; Li, W.; Zuberi, Z.; Wang, J.H.; Ren, J.L.; Fu, D.; Zeng, X.X.; Luo, J.F. Biosafety risk assessment of nanoparticles: Evidence from food case studies. Environ. Pollut. 2021, 244, 116662. [CrossRef]

15. Yaqoob, A.A.; Umar, K.; Ibrahim, M.N.M. Silver nanoparticles: Various methods of synthesis, size affecting factors and their potential applications—A review. Appl. Nanosci. 2020, 10, 1369–1378. [CrossRef]

16. Ali, A.; Phull, A.R.; Zia, M. Elemental zinc to zinc nanoparticles: Is ZnO NPs crucial for life? Synthesis, toxicological, and environmental concerns. Nanotechnol. Rev. 2018, 7, 413–441. [CrossRef]

17. Hasan, A.; Nanakali, N.M.Q.; Salih, A.; Rasti, B.; Sharifi, M.; Attar, F.; Derakhshankhah, H.; Mustafa, I.A.; Abdulqadir, S.Z.; Falahati, M. Nanozyme-based sensing platforms for detection of toxic mercury ions: An alternative approach to conventional methods. Talanta 2020, 215, 120939. [CrossRef]

18. Sarwarx, N.; Choi, S.H.; Dastgeer, G.; Bin Humayoun, U.; Kumar, M.; Nawaz, A.; Jeong, D.I.; Alam Zaidi, S.F.; Yoon, D.H. Synthesis of citrate-capped copper nanoparticles: A low temperature sintering approach for the fabrication of oxidation stable flexible conductive film. Appl. Surf. Sci. 2021, 542, 148609. [CrossRef]

19. Tiwary, K.; Ali, F.; Choube, S.; Mishra, R.; Sharma, K. Doping effect of Ni²⁺ ion on structural, morphological and optical properties of Zinc sulfide nanoparticles synthesized by microwave assisted method. Optik 2021, 227, 166045. [CrossRef]

20. Jena, P.; Bhattacharya, M.; Bhattacharjee, G.; Satpati, B.; Mukherjee, P.; Senapati, D.; Sinhivasan, R. Bimetallic gold–silver nanoparticles mediate bacterial killing by disrupting the actin cytoskeleton MreB. Nanoscale 2020, 12, 3731–3749. [CrossRef] [PubMed]

21. Xu, Z.; Zhao, H.; Liang, J.; Wang, Y.; Li, T.; Luo, Y.; Shi, X.; Lu, S.; Feng, Z.; Wu, Q.; et al. Noble-metal-free electrospun nanomaterials as electrolytocalecters for oxygen reduction reaction. Mater. Today Phys. 2020, 15, 100280. [CrossRef]

22. Tanaka, M.; Saito, S.; Kita, R.; Jang, J.; Choi, Y.; Choi, J.; Okochi, M. Array-Based Screening of Silver Nanoparticle Mineralization Peptides. Int. J. Mol. Sci. 2021, 22, 2377. [CrossRef] [PubMed]

23. Shi, X.; Qiao, Y.; An, X.; Tian, Y.; Zhou, H. Performance and mechanism. Int. J. Biol. Macromol. 2020, 159, 839–849. [CrossRef] [PubMed]

24. Harshini, M.; Iswarya, C.N.; Matheswaran, M. Biogenic synthesis of iron nanoparticles using Amaranthus dubius leaf extract as a reducing agent. Powder Technol. 2015, 274–275, 744–749. [CrossRef]

25. Yu, H.; Wang, M.; Zhou, J.; Yuan, B.; Luo, J.; Wu, W.; Chen, Z.; Yu, R. Microreactor-assisted synthesis of α-alumina nanopar-ticles. Ceram. Int. 2020, 46, 13272–13281. [CrossRef]

26. Sharma, S.; Virk, K.; Sharma, K.; Bose, S.K.; Kumar, V.; Sharma, V.; Focarete, M.L.; Kalia, S. Preparation of gum acacia-poly(acrylamide-IPN-acrylic acid) based nanocomposite hydrogels via polymerization methods for antimicrobial applications. J. Mol. Struct. 2020, 1215, 128298. [CrossRef]

27. Singh, K.R.; Nayak, V.; Sarkar, T.; Singh, R.P. Cerium oxide nanoparticles: Properties, biosynthesis and biomedical application. RSC Adv. 2020, 10, 27194–27214. [CrossRef]

28. Das, C.; Sen, S.; Singh, T.; Ghosh, T.; Paul, S.S.; Kim, T.W.; Jeon, S.; Mait, D.K.; Im, J.; Biswas, G. Green synthesis, characteri-zation and application of natural product coated magnetite nanoparticles for wastewater treatment. Nanomaterials 2020, 10, 1615. [CrossRef]

29. Cheira, M.F. Performance of poly sulfonamide/ nano-silica composite for adsorption of thorium ions from sulfate solution. SN Appl. Sci. 2020, 2, 1–19. [CrossRef]
30. Giannakis, S.; Liu, S.; Carratalá, A.; Rtimi, S.; Amiri, M.T.; Bensimon, M.; Pulgarin, C. Iron oxide-mediated semiconductor photocatalysis vs. heterogeneous photo-Fenton treatment of viruses in wastewater. Impact of the oxide particle size. *J. Hazard. Mater.* **2017**, *339*, 223–231. [CrossRef]

31. Laad, M.; Jatti, V.K.S. Titanium oxide nanoparticles as additives in engine oil. *J. King Saud Univ. Eng. Sci.* **2018**, *30*, 116–122. [CrossRef]

32. Obradović, V.; Simić, D.; Zrilić, M.; Stojanović, D.B.; Uskoković, P.S. Novel hybrid nanostructures of carbon nano-tube/fullerene-like Tungsten Disulfide as reinforcement for aramid fabric composites. *Fibers Polym.* **2021**, *22*, 1–12. [CrossRef]

33. White, D.L.; Lystrom, L.; He, X.; Burkert, S.C.; Killin, D.S.; Killina, S.; Star, A. Synthesis of holey graphene nanoparticle compounds. *ACS Appl. Mater. Interfaces* **2020**, *12*, 36513–36522. [CrossRef] [PubMed]

34. Ma, Y. Past, Present and Future of Carbon Nanotubes and Graphene based Electrode Materials for Energy Storage Batteries. *Int. J. Electrochem. Sci.* **2020**, *15*, 10315–10329. [CrossRef]

35. Sengupta, D.; Chen, S.-H.; Michael, A.; Kwok, C.Y.; Lim, S.; Pei, Y.; Kottapalli, A.G.P. Single and bundled carbon nanofibers as ultralightweight and flexible piezoresistive sensors. *npj Flex. Electron.* **2020**, *4*, [CrossRef]

36. Fawole, O.G.; Cai, X.M.; Nikolova, I.; MacKenzie, A.R. Self-consistent estimates of emission factors of carbon-containing pol-lutants from a typical gas flare. *Ife J. Sci.* **2020**, *22*, 135–149. [CrossRef]

37. Zhang, X.F.; Liu, Z.G.; Shen, W.; Gurunathan, S. Silver nanoparticles: Synthesis, characterization, properties, applications, and therapeutic approaches. *Int. J. Mol. Sci.* **2016**, *17*, 1534. [CrossRef]

38. Marandi, M.; Torabi, N. The constructive role of ZnSe passivating layer on the photovoltaic performance of the fast-fabricated CdS/CdSe quantum dot sensitized solar cells. *Opt. Mater.* **2020**, *105*, 109918. [CrossRef]

39. Zhou, R.; Fu, S.; Li, H.; Yuan, D.; Tang, B.; Zhou, G. Experimental study on thermal performance of copper nanofluids in a miniature heat pipe fabricated by wire electrical discharge machining. *Appl. Therm. Eng.* **2019**, *160*, 113989. [CrossRef]

40. Xu, L.; Wang, Y.Y.; Huang, J.; Chen, C.Y.; Wang, Z.X.; Xie, H. Silver nanoparticles: Synthesis, medical applications and bi-osafety. *THERANOSTICS* **2020**, *10*, 8996. [CrossRef]

41. Menazea, A. Femtosecond laser ablation-assisted synthesis of silver nanoparticles in organic and inorganic liquids medium and their antibacterial efficiency. *Radiat. Phys. Chem.* **2020**, *168*, 108616. [CrossRef]

42. Duque, J.S.; Madrigal, B.M.; Riascos, H.; Avila, Y.P. Colloidal Metal Oxide Nanoparticles Prepared by Laser Ablation Technique and Their Antibacterial Test. *Colloids Interfaces* **2019**, *3*, 25. [CrossRef]

43. Jung, J.H.; Oh, H.C.; Noh, H.S.; Ji, J.H.; Kim, S.S. Metal nanoparticle generation using a small ceramic heater with a local heating area. *J. Aerosol Sci.* **2006**, *37*, 1662–1670. [CrossRef]

44. Nakano, M.; Fujiwara, T.; Koga, N. Thermal Decomposition of Silver Acetate: Physico-Geometrical Kinetic Features and Formation of Silver Nanoparticles. *J. Phys. Chem. C* **2016**, *120*, 8841–8854. [CrossRef]

45. Tsuji, T.; Thang, D.-H.; Okazaki, Y.; Nakanishi, M.; Tsuji, M. Preparation of silver nanoparticles by laser ablation in polyvinylpyrrolidone solutions. *Appl. Surf. Sci.* **2008**, *254*, 5224–5230. [CrossRef]

46. Zamiri, R.; Azmi, B.Z.; Sadrolhosseini, A.R.; Ahangar, H.A.; Zaidan, A.W.; Mahdi, M.A. Preparation of silver nanoparticles in virgin coconut oil using laser ablation. *Int. J. Nanomed.* **2011**, *6*, 71. [CrossRef]

47. Navaladjan, S.; Viswanathan, B.; Viswanath, R.P.; Varadarajan, T.K. Thermal decomposition as route for silver nanoparticles. *Nanoscale Res. Lett.* **2007**, *2*, 44–48. [CrossRef] [PubMed]

48. Rhim, J.-W.; Wang, L.-F.; Lee, Y.; Hong, S.-I. Preparation and characterization of bio-nanocomposite films of agar and silver nanoparticles: Laser ablation method. *Carbohydr. Polym.* **2014**, *108–111*. [CrossRef]

49. Rahmat, M.A.;/perfectCHANNEL/Makotani, Y.; Komatsu, Y.; Bakhshandeh, A.; Mahdi, M.A. Fabrication of Silver Nanoparticles Dispersed in Palm Oil Using Laser Ablation. *Int. J. Mol. Sci.* **2010**, *11*, 4764–4770. [CrossRef]

50. Ismail, R.A.; Sulaiman, G.M.; Mohsin, M.; Saadoon, A.H. Preparation of silver iodide nanoparticles using laser ablation in liquid for antibacterial applications. *IET Nanotechnology* **2018**, *12*, 781–786. [CrossRef] [PubMed]

51. Parida, D.; Simonetti, P.; Frison, R.; Bülbül, E.; Altenried, S.; Arroyo, Y.; Balogh-Michels, Z.; Caseri, W.; Ren, Q.; Hufenus, R.; et al. Polymer-assisted in-situ thermal reduction of silver precursors: A solventless route for silver nanoparticles-polymer composites. *Chem. Eng. J.* **2020**, *389*, 123983. [CrossRef]

52. Jeewanandam, P.; Srikanth, C.K.; Dixit, S. Synthesis of monodisperse silver nanoparticles and their self-assembly through simple thermal decomposition approach. *Mater. Chem. Phys.* **2010**, *122*, 402–407. [CrossRef]

53. Verma, S.; Rao, B.; Srivastava, A.; Srivastava, D.; Kaul, R.; Singh, B. A facile synthesis of broad plasmon wavelength tunable silver nanoparticles in citrate aqueous solutions by laser ablation and light irradiation. *Colloids Surf. A Physicochem. Eng. Asp.* **2017**, *527*, 23–33. [CrossRef]

54. Boutinguiza, M.; Comesaña, R.; Lusquiños, F.; Riveiro, A.; del Val, J.; Pou, J. Production of silver nanoparticles by laser ablation in open air. *Appl. Surf. Sci.* **2015**, *336*, 108–111. [CrossRef]

55. Taghizadeh T.; Tsuchida, K.; Soma, S.; Nozawa, R.; Matsui, J.; Kanazawa, K.; Kuribara, M. Size-tunable continuous-seed-mediated growth of silver nanoparticles in Alkylamine mixture via the stepwise thermal decomposition of Silver Oxalate. *Chem. Mater.* **2020**, *32*, 9363–9370. [CrossRef]

56. Irvani, S.; Korbekandi, H.; Mirmohammadi, S.V.; Zolfaghari, B. Synthesis of silver nanoparticles: Chemical, physical and biological methods. *Res. Pharm. Sci.* **2014**, *9*, 385.
57. Khaydarov, R.A.; Khaydarov, R.R.; Gapurova, O.; Estrin, Y.; Scheper, T. Electrochemical method for the synthesis of silver nanoparticles. J. Nanopart. Res. 2009, 11, 1193–1200. [CrossRef]

58. Mohaghegh, S.; Osooli-Bostanabad, K.; Nazemiyeh, H.; Javadzadeh, Y.; Parvizpur, A.; Barzegar-Jalali, M.; Adibkia, K. A comparative study of eco-friendly silver nanoparticles synthesis using Prumnus domestica plum extract and sodium citrate as reducing agents. Adv. Powder Technol. 2020, 31, 1169–1180. [CrossRef]

59. Al-Awadi, A.S.; El-Toni, A.M.; Alhoshan, M.; Khan, A.; Labis, J.P.; Al-Fatesh, A.; Abasaeeed, A.E.; Al-Zahrani, S.M. Impact of precursor sequence of addition for one-pot synthesis of Cr-MCM-41 catalyst nanoparticles to enhance ethane oxidative dehydrogenation with carbon dioxide. Ceram. Int. 2019, 45, 1125–1134. [CrossRef]

60. Bachhav, P.A.; Shroff, R.M.; Shirkhedkar, A.A. Silver nanoparticles: A comprehensive review on mechanism, synthesis and biomedical applications. Asian J. Pharm. Res. 2020, 10. [CrossRef]

61. Zarlaida, F.; Adlim, M. Gold and silver nanoparticles and indicator dyes as active agents in colorimetric spot and strip tests for mercury(II) ions: A review. Microchem. Acta 2017, 184, 45–58. [CrossRef]

62. Xue, Y.; Zhan, X.; Sun, S.; Karuppagounder, S.S.; Xia, S.; Dawson, V.L.; Dawson, T.M.; Laterra, J.; Zhang, J.; Ying, M. Synthetic mRNAs Drive Highly Efficient iPS Cell Differentiation to Dopaminergic Neurons. STEM CELLS Transl. Med. 2019, 8, 112–123. [CrossRef]

63. Hoang, V.-T.; Dinh, N.X.; Pham, T.N.; Hoang, T.V.; Tuan, P.A.; Huy, T.Q.; Le, A.-T. Scalable Electrochemical Synthesis of Novel Biogenic Silver Nanoparticles and Its Application to High-Sensitive Detection of 4-Nitrophenol in Aqueous System. Adv. Polym. Technol. 2021, 2021, 6646219. [CrossRef]

64. Mallakpour, S.; Hussain, C.M.; Gulati, S.; Diwan, A.; Singh, P.; Mongia, A. “Nanosilver”: A Versatile and New-Generation Nanopropuct in Biomedical Applications. Available online: https://link.springer.com/referenceworkentry/10.1007%2F10978-981-15-6433-6_48-1 (accessed on 18 June 2021).

65. Gao, H.; Yang, H.; Wang, C. Controllable preparation and mechanism of nano-silver mediated by the microemulsion system of the clove oil. Results Phys. 2017, 7, 3130–3136. [CrossRef]

66. Lin, F.; Zheng, J.; Guo, W.; Zhu, Z.; Wang, Z.; Dong, B.; Lin, C.; Huang, B.; Lu, B. Smart cellulose-derived magnetic hydrogel with rapid swelling and deswelling properties for remotely controlled drug release. Cellulose 2019, 26, 6861–6877. [CrossRef]

67. Massironi, A.; Morelli, A.; Grassi, L.; Puppi, D.; Braccini, S.; Maisetta, G.; Esin, S.; Batoni, G.; Della Pina, C.; Chiellini, F. Ulvan shapes and application for tissue engineering. J. Nanopart. Res. 2020, 23, 563–573. [CrossRef]

68. Proessl, C.; Kuebler, M.; Nowroozii, M.A.; Paul, S.; Clemens, O.; Kramm, U.I. Investigation of the thermal removal steps of capping agents in the synthesis of bimetallic iridium-based catalysts for the ethanol oxidation reaction. Phys. Chem. Chem. Phys. 2021, 23, 563–573. [CrossRef]

69. Mei, L.; Li, S.; Shao, Y.; Zhang, C.; Wang, J. Single-step synthesis of hierarchical flower-like silver structures with assistance of gallic acid. Mater. Res. Express 2021, 8, 015010. [CrossRef]

70. Jiang, S.; Tang, C.; Gong, Z.; Zhang, Z.; Wang, D.; Fan, M. Facile preparation of chitosan coated silver nanoparticles embedded cotton fabric for point-of-use water disinfection. Mater. Lett. 2020, 277, 128256. [CrossRef]

71. Rahimi, M.; Noruzi, E.B.; Sheykhssaran, E.; Ebadi, B.; Kariminezhad, Z.; Molaparast, M.; Mehrabani, M.G.; Mehrmouz, B.; Yousefi, M.; Ahmadi, R.; et al. Carbohydrate polymer-based silver nanocomposites: Recent progress in the antimicrobial wound dressings. Carbohydr. Polym. 2020, 231, 115696. [CrossRef]

72. Murgunde, B.K.; Mulla, R.; Rabinal, M.K. A rapid synthesis of silver nanoparticle foam by ultrasonication. J. Porous Mater. 2020, 27, 1727–1733. [CrossRef]

73. Diaz-Alvarez, A.; Higuchi, R.; Li, Q.; Shingaya, Y.; Nakayama, T. Associative routing through neuromorphic nanowire net-works. AIP Adv. 2020, 10, 025134. [CrossRef]

74. Ndwandwe, B.K.; Malinga, S.P.; Kayitesi, E.; Dlamini, B.C. Advances in green synthesis of selenium nanoparticles and their application in food packaging. Int. J. Food Sci. Technol. 2020, 56, 2640–2650. [CrossRef]
81. Mahmood, M.; Abid, M.; Nazar, M.F.; Zafar, M.N.; Raza, M.A.; Ashfaq, M.; Khan, A.M.; Sumrta, S.H.; Zubair, M. The wet chemical synthesis of surfactant-capped quasi-spherical silver nanoparticles with enhanced antibacterial activity. Mater. Adv. 2020, 1. [CrossRef]

82. Heidari, B.; Salmani, S.; Ghamarsi, M.S.; Ahmadi, M.; Majles-Ara, M.H. Ag/PVP nanocomposite thin film with giant optical nonlinearity. Opt. Quantum Electron. 2020, 52, 86. [CrossRef]

83. Zhu, F.; Zheng, Y.-M.; Zhang, B.-G.; Dai, Y.-R. A critical review on the electrospun nanofibrous membranes for the adsorption of heavy metals in water treatment. J. Hazard. Mater. 2020, 401, 123608. [CrossRef] [PubMed]

84. Kuntyi, O.I.; Kytsya, A.R.; Mertsalp, I.P.; Mazur, A.S.; Zozula, G.I.; Bazylak, L.I.; Topchak, R.V. Electrochemical synthesis of silver nanoparticles by reversible current in solutions of sodium polyacrylate. Colloid Polym. Sci. 2019, 297, 689–695. [CrossRef]

85. Iravani, S., Varma, R.S. Greener synthesis of lignin nanoparticles and their applications. Green Chem. 2020, 22, 612–636. [CrossRef]

86. Isogai, A. Cellulose Nanofibers: Recent Progress and Future Prospects. J. Fiber Sci. Technol. 2020, 76, 310–326. [CrossRef]

87. Ifikhar, M.; Zahoor, M.; Naz, S.; Nazir, N.; Bathia, G.E.S.; Ullah, R.; Bari, A.; Hanif, M.; Mahmood, H.M. Green synthesis of silver nanoparticles using Grewia optiva leaf Aqueous extract and isolated compounds as reducing agent and their bio-logical activities. J. Nanomater. 2020, 2020, 8949674. [CrossRef]

88. Zarei, Z.; Razmjoue, D.; Karimi, J. Green synthesis of silver nanoparticles from Caralluma tuberculata extract and its antibac-terial activity. J. Inorg. Organomet. Polym. Mater. 2020, 30, 4606–4614. [CrossRef]

89. Goswami, T.; Bheemaraju, A.; Sharma, A.K.; Bhandari, S. Perylene-tertcarboxylic acid–incorporated silver nanocluster for cost-effective visible-light-driven photocatalysis and catalytic reduction. Colloid Polym. Sci. 2021, 299, 925–936. [CrossRef]

90. Li, B.J.; Li, S.; Ma, B.R.; Jing, Y.; Zhang, Z.M.; Li, Z.J.; Zhao, S.Y. Progress in the Preparation of Silver Nanometer Antibacterial Material. Mater. Sci. Forum 2020, 996, 76–81. [CrossRef]

91. Verma, D.; Mudgal, B.; Chaudhary, P.; Mahakur, B.; Mitra, D.; Pant, K.; Mohapatra, P.K.D.; Thapliyal, A.; Jammeda, P. Medicinal plant of Uttarakhand (India) and their benefits in the treatment of tuberculosis: Current perspectives. J. BioSci. Biotechnol. 2020, 9, 75–85.

92. Muhammad, A.; Kashere, M.A. Neem, Azadirachta indica L. (A. Juss): An eco-friendly botanical insecticide for managing farmers’ insects pest problems-a review. FLIDMA J. Sci. 2020, 4, 484–491. [CrossRef]

93. Abdullah, M.R.; Haque, M.E.; Sarwar, A.K.M.G.; Ashrafuzzaman, M.; Rahman, M.M. Diversity of underutilized fruits and their uses in Karnaphuli range, Rangamati, Bangladesh. Int. J. For. Ecol. Environ. 2020, 1, 10–20. [CrossRef]

94. Grkovic, T.; Akee, R.K.; Thornburg, C.C.; Trinh, S.K.; Britt, J.R.; Harris, M.J.; Evans, J.R.; Kang, U.; Ensel, S.; Henrich, C.J.; et al. National Cancer Institute (NCI) program for natural products discovery: Rapid isolation and identification of biologically active natural products from the NCI prefractrationed library. ACS Chem. Biol. 2020, 15, 1104–1114. [CrossRef] [PubMed]

95. Baydoun, S.A.; Kanj, D.; Raafat, K.; Aboul Ela, M.; Chalak, L.; Arnold-Apostolides, N. Ethnobotanical and economic importance of wild plant species of Jabal Moussa Bioserve, Lebanon. J. Ecosys. Ecolograph. 2017, 57, 1. [CrossRef]

96. Ali, S.; Bansal, S.; Mishra, R.P. Fumaria indica (L), a Famous Medicinal Herb of Tribal Regions of Jabalpur, Madhya Pradesh: Broad Spectrum Antibacterial and Phytochemical Profiling against Some Pathogenic Microorganisms. Pharmacogn. J. 2020, 12, 619–623. [CrossRef]

97. Pollo, L.A.; Martin, E.F.; Machado, V.R.; Cantillon, D.; Wildner, L.M.; Bazzo, M.I.; Waddeil, S.J.; Biavatti, M.W.; Sandjo, L.P. Search for antimicrobial activity among fifty-two natural and synthetic compounds identifies Anthraquinone and Polya-cetylene classes of compounds with antifungal activity. J. Inorg. Organomet. Polym. Mater. 2020, 30, 4606–4614. [CrossRef]

98. Sawicka, B.; Otekunrin, O.A.; Skiba, D.; Bienia, B.; ´Cwintal, M. Plant-derived stimulants and psychoactive substances–social and economic aspects. Clin. Med. Res. 2020, 5, 313–335.

99. Duguma, H.T. Wild Edible Plant Nutritional Contribution and Consumer Perception in Ethiopia. Int. J. Food Sci. 2020, 2020, 1–16. [CrossRef] [PubMed]

100. Fahmy, H.M.; Eldin, R.E.S.; Abu Serea, E.S.; Gomaa, N.M.; Aboelmagd, G.M.; Salem, S.A.; Elsayed, Z.A.; Edrees, A.; Shams-Eldin, E.; Shalan, A.E. Advances in nanotechnology and antibacterial properties of biodegradable food packaging materials. RSC Adv. 2020, 10, 20467–20484. [CrossRef]

101. Cobos, M.; De-La-Pinta, I.; Quindós, G.; Fernández, M.J.; Fernández, M.D. Graphene oxide–silver nanoparticle nanohybrids: Synthesis, characterization, and antimicrobial properties. Nanomaterials 2020, 10, 376. [CrossRef]

102. Ahmed, M.S.; Soundhararajan, R.; Akther, T.; Kashif, M.; Khan, J.; Waseem, M.; Srinivasan, H. Biogenic AgNPs synthesized via endophytic bacteria and its biological applications. Environ. Sci. Pollut. Res. 2019, 26, 26939–26946. [CrossRef] [PubMed]

103. Hafeez, M.; Shaheen, R.; Akram, B.; Abdin, Z.U.; Haq, S.; Mahsud, S.; Ali, S.; Khan, R.T. Green synthesis of cobalt oxide nanoparticles using potential biological applications. Mater. Res. Express 2020, 7, 025019. [CrossRef]

104. Khan, A.U.; Malik, N.; Khan, M.; Cho, M.H.; Khan, M.M. Fungi-assisted silver nanoparticle synthesis and their applications. Bioprocess Biosyst. Eng. 2017, 41, 1–20. [CrossRef]

105. Elbaghdady, K.; EL-Shatoury, E.I.N.; Abdallah, O.; Khalil, M. Biogenic production of silver nanoparticles by Enterobacter clo-aceae Ism26. Turk. J. Biol. 2018, 42, 319–328. [CrossRef]

106. Jadoun, S.; Arif, R.; Jangid, N.K.; Meena, R.K. Green synthesis of nanoparticles using plant extracts: A review. Environ. Chem. Lett. 2020, 19, 355–374. [CrossRef]

107. Wong, X.Y.; Sena-Torralba, A.; Álvarez-Diduk, R.; Muthosamy, K.; Merkoçi, A. Nanomaterials for Nanotheranostics: Tuning Their Properties According to Disease Needs. ACS Nano 2020, 14, 2585–2627. [CrossRef]
108. Shanab, S.M.M.; Partila, A.M.; Ali, H.E.A.; Abdullah, M.A. Impact of gamma-irradiated silver nanoparticles biosynthesized from Pseudomonas aeruginosa on growth, lipid, and carbohydrates of Chlorella vulgaris and Dictyochloropsis splendida. *J. Radiat. Res. Appl. Sci.* 2020, 14, 70–81. [CrossRef]

109. Zuorro, A.; Iannone, A.; Natali, S.; Lavechia, R. Green Synthesis of Silver Nanoparticles Using Bilberry and Red Currant Waste Extracts. *Processes* 2019, 7, 193. [CrossRef]

110. Baiocco, D.; Lavechia, R.; Natali, S.; Zuorro, A. Production of metal nanoparticles by agro-industrial wastes: A green opportunity for nanotechnology. *Chem. Eng. Trans.* 2016, 47, 67–72.

111. Amgoth, C.; Singh, A.; Santhosh, R.; Yumnam, S.; Mangla, P.; Karthik, R.; Gaping, T.; Banavoth, M. Solvent assisted size effect on AuNPs and significant inhibition on K562 cells. *RSC Adv.* 2019, 9, 33931–33940. [CrossRef]

112. Rónavári, A.; Igaz, N.; Adamecz, D.; Szercencsés, B.; Molnar, C.; Kónya, Z.; Pfeiffer, I.; Kiricsi, M. Green Silver and Gold Nanoparticles: Biological Synthesis Approaches and Potentials for Biomedical Applications. *Molecules* 2021, 26, 844. [CrossRef] [PubMed]

113. Sundarrajan, S.K.; Pottail, L. Green synthesis of bimetallic Ag@Au nanoparticles with aqueous fruit latex extract of Artocarpus heterophyllus and its synergistic medicinal efficacy. *Appl. Nanosci.* 2021, 11, 971–981. [CrossRef]

114. Manikandan, V.; Velmurugan, P.; Jayanthi, P.; Park, J.H.; Chang, W.S.; Park, Y.J.; Cho, M.; Oh, B.T. Biogenic synthesis from Prunus × yedoensis leaf extract, characterization, and photocatalytic and antibacterial activity of TiO 2 nanoparticles. *Res. Chem. Intermed.* 2018, 44, 2489–2502. [CrossRef]

115. Eisa, W.H.; Zayed, M.F.; Anis, B.; Abbass, L.M.; Ali, S.S.; Mostafa, A. Clean production of powdery silver nanoparticles using Zingiber officinale: The structural and catalytic properties. *J. Clean. Prod.* 2019, 241, 118398. [CrossRef]

116. Morales-Lozoya, V.; Espinoza-Gómez, H.; Flores-López, L.Z.; Setelo-Barrera, E.L.; Núñez-Rivera, A.; Cadena-Nava, R.D.; Alonso-Nuñez, G.; Rivero, I.A. Study of the effect of the different parts of Morinda citrifolia L. (noni) on the green synthesis of silver nanoparticles and their antibacterial activity. *Appl. Surf. Sci.* 2021, 537, 147855. [CrossRef]

117. Mahdavi-Ourtakand, M.; Jafari, P.; Safaeijavan, R. Antibacterial activity of biosynthesized silver nanoparticles from fruit ex-tracts of Bunium persicum Boiss. *Int. J. Bio-Inorg. Hybr. Nanomater.* 2017, 6, 245–251.

118. Thirumagal, N.; Jeyakumari, A.P. Structural, Optical and Antibacterial Properties of Green Synthesized Silver Nanoparticles (AgNPs) Using Justicia adhatoda L. Leaf Extract. *J. Clust. Sci.* 2020, 31, 487–497. [CrossRef]

119. Farah, M.A.; Ali, M.; Chen, S.-M.; Li, Y.; Al-Hemaid, F.M.; Abou-Tarboush, F.M.; Al-Anazi, K.M.; Lee, J. Silver nanoparticles synthesized from Adenium obesum leaf extract induced DNA damage, apoptosis and autophagy via generation of reactive oxygen species. *Colloids Surf. B Biointerfaces* 2016, 141, 158–169. [CrossRef]

120. Keijok, W.J.; Pereira, R.H.A.; Alvarez, L.A.C.; Prado, A.R.; da Silva, A.R.; Ribeiro, J.; De Oliveira, J.P.; Guimarães, J.; de Carvalho, V.M. controlled biosynthesis of gold nanoparticles with Coffea arabica using factorial design. *Sci. Rep.* 2019, 9, 16019. [CrossRef]

121. Jahagirdar, A.S.; Shende, S.; Gade, A.; Rai, M. Bioinspired Synthesis of Copper Nanoparticles and its Efficacy on Seed Viability and Seedling Growth in Mungbean (Vigna radiata L.). *Curr. Nanosci.* 2020, 16, 246–252. [CrossRef]

122. Chauhan, N.; Tyagi, A.K.; Kumar, P.; Malik, A. Antibacterial Potential of Jatropha curcas Synthesized Silver Nanoparticles against Food borne Pathogens. *Front. Microbiol.* 2020, 11, 7, 1748. [CrossRef] [PubMed]

123. Guní, L.; Dass, R.S.; Kalagatur, N.K. Phytofibracation of selenium nanoparticles from Emblica officinalis fruit extract and exploring its biopotential applications: Antioxidant, antimicrobial, and biocompatibility. *Front. Microbial.* 2019, 10, 931. [CrossRef] [PubMed]

124. Aritonang, H.F.; Koleangan, H.; Wuntu, A.D. Synthesis of Silver Nanoparticles Using Aqueous Extract of Medicinal Plants’ (Impatias balsamina and Lantana camara) Fresh Leaves and Analysis of Antimicrobial Activity. *Int. J. Microbial.* 2019, 2019, 1–8. [CrossRef]

125. Nabikhan, A.; Kandasamy, K.; Raj, A.; Alikunhi, N.M. Synthesis of antimicrobial silver nanoparticles by callus and leaf extracts from saltmarsh plant, Sesuvium portulacastrum L. *Colloids Surf. B Biointerfaces* 2010, 79, 488–493. [CrossRef]

126. Robles-Martínez, M.; Patiño-Herrera, R.; Pérez-Vázquez, F.J.; Montejano-Carrizales, J.M.; González, J.F.C.; Pérez, E. Mentha piperita as a natural support for silver nanoparticles: A new anti-Candida albicans treatment. *Colloid Interface Sci. Commun.* 2020, 35, 100253. [CrossRef]

127. Gopinath, V.; MubarakAli, D.; Priyadarshini, S.; Priyadharsshini, N.M.; Thajuddin, N.; Velusamy, P. Biosynthesis of silver nanoparticles from Tribulus terrestris and its antimicrobial activity: A novel biological approach. *Colloids Surf. B Biointerfaces* 2012, 96, 69–74. [CrossRef] [PubMed]

128. Mishra, A.K.; Tiwari, K.N.; Saini, R.; Kumar, P.; Mishra, S.K.; Yadav, V.B.; Nath, G. Green Synthesis of Silver Nanoparticles from Leaf Extract of Nyctanthes arbor-tristis L. and Assessment of Its Antioxidant, Antimicrobial Response. *J. Inorg. Organomet. Polym. Mater.* 2019, 30, 2266–2278. [CrossRef]

129. Mankad, M.; Patil, G.; Patel, D.; Patel, P.; Patel, A. Comparative studies of sunlight mediated green synthesis of silver nanoparticles from Azadirachta indica leaf extract and its antibacterial effect on Xanthomonas oryzae pv. oryzae. *Arab. J. Chem.* 2020, 13, 2865–2872. [CrossRef]

130. Kgatshe, M.; Aremu, O.S.; Katata-Seru, L.; Gopane, R. Characterization and Antibacterial Activity of Biosynthesized Silver Nanoparticles Using the Ethanolic Extract of Pelargonium sidoides DC. *J. Nanomater.* 2019, 2019, 1–10. [CrossRef]

131. Dawodu, F.A.; Onuh, C.U.; Akpomie, K.G.; Unuabonah, E.I. Synthesis of silver nanoparticle from Vigna unguiculata stem as adsorbent for malachite green in a batch system. *SN Appl. Sci.* 2019, 1, 1–346. [CrossRef]
132. Aref, M.S.; Salem, S.S. Bio-callus synthesis of silver nanoparticles, characterization, and antibacterial activities via Cin-namomum camphora callus culture. Biocatal. Agric. Biotechnol. 2020, 27, 101689. [CrossRef]

133. Aref, M.S.; Salem, S.S. Bio-callus synthesis of silver nanoparticles, characterization, and antibacterial activities via Cin-namomum camphora callus culture. Biocatal. Agric. Biotechnol. 2020, 27, 101689. [CrossRef]

134. Nikparast, Y.; Ghorbani, R.; Ahmadzadeh, H.; Asadi, G. Green synthesis of silver nanoparticles using Amaranthus retroflexus and its antibacterial effect. J. Plant. Protect. 2018, 32, 139–146.

135. Lykogianni, M.; Papadopoulou, E.-A.; Sapalidis, A.; Tsourvas, D.; Sideratou, Z.; Aliferis, K.A. Metabolomics reveals different mechanisms of toxicity of hyperbranched poly(ethylenimine)-derived nanoparticles to the soil-borne fungus Verticillium dahliae Kleb. Pestic. Biochem. Physiol. 2020, 165, 105435. [CrossRef] [PubMed]

136. Dutta, P.; Kumari, J.; Borah, P.; Baruah, P.; Kaman, P.K.; Das, G.; Kumari, A.; Saikia, B. Synthesis of fungus mediated silver nanoparticles (AgNP) its characterization and study the efficacy against inoculum, biomass and protein content of Fusarium oxysporum. Int. J. Chem. Stud. 2020, 8, 2619–2625. [CrossRef]

137. Soltani-Horand, P.; Vagheri, H.; Soltani-Horand, J.; Adibpour, M.; Jafarizadeh-Malmiri, H. Extracellular mycosynthesis of an-tilbacterial silver nanoparticles using aspergillus flavus and evaluation of their characteristics. Int. J. Nanosci. 2020, 19, 1950009. [CrossRef]

138. Dar, M.A.; Ingle, A.; Rai, M. Enhanced antimicrobial activity of silver nanoparticles synthesized by Cryphonectria sp. evaluated singly and in combination with antibiotics. Nanomod. Nanotechnol. Biol. Med. 2013, 9, 105–110. [CrossRef]

139. Netala, V.R.; Bethu, M.S.; Pushpalatha, B.; Baki, V.B.; Aishwarya, S.; Rao, J.V.; Tartte, V. Biogenesis of silver nanoparticles using endophytic fungus Pestalotiopsis microspera and evaluation of their antioxidant and anticancer activities. Int. J. Nanomed. 2016, 11, 5683–5696. [CrossRef]

140. Huang, Z.; Zeng, Z.; Song, Z.; Chen, A.; Zeng, G.; Xiao, R.; He, K.; Yuan, L.; Li, H.; Chen, G. Antimicrobial efficacy and mechanisms of silver nanoparticles against Phanerochaete chrysosporium in the presence of common electrolytes and humic acid. J. Hazard. Mater. 2020, 383, 121153. [CrossRef]

141. Salunkhe, R.B.; Patil, S.V.; Patil, C.; Salunke, B.K. Larvicidal potential of silver nanoparticles synthesized using fungus Cochliobolus lunatus against Aedes aegypti (Linnaeus, 1762) and Anopheles stephensi Liston (Diptera: Culicidae). Parasitol. Res. 2011, 109, 823–831. [CrossRef]

142. Ammar, H.A.M.; El-Desouky, T.A. Green synthesis of nanosilver particles by Aspergillus terreus HA 1N and Penicillium ex-pansum HA 2N and its antifungal activity against mycotoxigenic fungi. J. Appl. Microbiol. 2016, 121, 89–100. [CrossRef]

143. Musarrat, J.; Dwivedi, S.; Singh, B.R.; Al-Khedhairy, A.; Azam, A.; Naqvi, A.; Naqvi, A.; Naqvi, A. Production of antimicrobial silver nanoparticles in water extracts of the fungus Amylomyces rouxii strain KSU-09. Braz. Arch. Biol. Technol. 2015, 58, 35–44. [CrossRef]

144. Sarsar, V.; Selwal, M.K.; Selwal, K.K. Biogenic synthesis, optimisation and antibacterial efficacy of extracellular silver nanoparticles using novel fungal isolate Aspergillus fumigatus MA. IET Nanobiotechnol. 2016, 10, 215–221. [CrossRef]

145. Chengzheng, W.; Jiazhi, W.; Shuangjiang, C.; Swamy, M.K.; Sinniah, U.R.; Akhtar, M.; Umar, A. Biogenic synthesis, characterization and evaluation of silver nanoparticles from Aspergillus niger JX56221 against human colon cancer cell line HT-29. J. Nanosci. Nanotechnol. 2018, 18, 3673–3681. [CrossRef]

146. El-Gazzar, N.; Ismail, A.M. The potential use of Titanium, Silver and Selenium nanoparticles in controlling leaf blight of tomato caused by Alternaria alternata. Bio catast. Agric. Biotechnol. 2020, 27, 101708. [CrossRef]

147. Kumar, R.R.; Priyadharsani, K.P.; Thamaraiselvi, K. Mycogenic synthesis of silver nanoparticles by the Japanese environmental isolate Aspergillus tamarii. J. Nanomater. Res. 2012, 14, 1–7. [CrossRef]

148. Abdel-Hafez, S.I.I.; Nafady, N.A.; Abdel-Rahim, I.R.; Shaltout, A.M.; Mohamed, M.A. Biogenesis and Optimisation of Silver Nanoparticles by the Endophytic Fungus Cladosporium sphaerospermum. J. Nanopart. Res. 2012, 14, 208–216. [CrossRef]

149. Abeid, S.L.; Nafady, N.A.; Abdel-Rahim, I.R.; Shaltout, A.M.; Mohamed, M.A. Biogenesis and Optimisation of Silver Nanoparticles by the Endophytic Fungus Cladosporium sphaerospermum. Int. J. Nanomater. Chem. 2016, 2, 11–19. [CrossRef]

150. Momin, B.; Rahman, S.; Jha, N.; Annupure, U.S. Valorization of mutant Bacillus licheniformis M09 supernatant for green synthesis of silver nanoparticles: Photocatalytic dye degradation, antibacterial activity, and cytotoxicity. Bioprocess Biosyst. Eng. 2019, 42, 541–553. [CrossRef]

151. Al-Turnachy, H.H.H.; Aldujaili, N.H. Isolation of metallic Klebsiella Pneumoniae HHHF1 potent for AgNPs nanobiosynthesis from iron-rich soil samples. AIP Conf. Proc. 2020, 2290, 020039. [CrossRef]

152. John, M.S.; Nagoth, J.A.; Ramasamy, K.P.; Mancini, A.; Giuli, G.; Natalello, A.; Ballarini, P.; Miceli, C.; Pucciarelli, S. Synthesis of Bioactive Silver Nanoparticles by a Pseudomonas Strain Associated with the Antarctic Psychrophilic Protozoon Euplotes focardii. Mar. Drugs 2020, 18, 38. [CrossRef]

153. Rafirska, K.; Pomastowski, P.; Buszewski, B. Study of Bacillus subtilis response to different forms of silver. Sci. Total Environ. 2019, 661, 120–129. [CrossRef]

154. Hussein, E.A.M.; Mohammad, A.A.-H.; Harraz, F.A.; Ahsan, M.F. Biologically Synthesized Silver Nanoparticles for Enhancing Tetracycline Activity against Staphylococcus aureus and Klebsiella pneumoniae. Braz. Arch. Biol. Technol. 2019, 62. [CrossRef]

155. Bagherzade, G.; Tavakoli, M.M.; Namei, M.H. Green synthesis of silver nanoparticles using aqueous extract of saffron (Crocus sativus L.) wasatches and its antibacterial activity against six bacteria. Asian Pac. J. Trop. Biomed. 2017, 7, 227–233. [CrossRef]

156. Manivasagan, P.; Venkatesan, J.; Senthilkumar, K.; Sivakumar, K.; Kim, S.K. Biosynthesis, antimicrobial and cytotoxic effect of silver nanoparticles using a novel Nocardiopsis sp. MBRC-1. Bio Med Res. Int. 2013, 2013, 287638.
157. Rajeshkumar, S.; Malarkodi, C. Optimization of Serratia nematodiphila using response surface methodology to silver nanoparticles synthesis for aquatic pathogen control. *IOP Conf. Ser. Mater. Sci. Eng.* 2017, 1, 022041. [CrossRef]

158. Alsamhary, I.K. Eco-friendly synthesis of silver nanoparticles by Bacillus subtilis and their antibacterial activity. *Saudi J. Biol. Sci.* 2020, 27, 2185–2191. [CrossRef]

159. Li, J.; Tian, B.; Li, T.; Dai, S.; Weng, Y.; Lu, J.; Xu, X.; Jin, Y.; Pang, R.; Hua, Y. Biosynthesis of Au, Ag and Au–Ag bimetallic nanoparticles using protein extract of Deinococcus radiodurans and evaluation of their cytotoxicity. *Int. J. Nanomed.* 2018, 13, 1411. [CrossRef][PubMed]

160. El-Bendary, M.A.; Afifi, S.S.; Moharam, M.E.; El-Ola, S.M.A.; Salama, A.; Omara, E.A.; Shaheen, M.N.F.; Hamed, A.A.; Gawdat, N.A. Biosynthesis of silver nanoparticles using isolated Bacillus subtilis: Characterization, antimicrobial activity, cytotoxicity, and their performance as an antibacterial agent for textile materials. *Prep. Biochem. Biotechnol.* 2020, 51, 4–68. [CrossRef]

161. Du, R.; Zhao, F.; Peng, Q.; Zhou, Z.; Han, Y. Production and characterization of bacterial cellulose produced by Glu-conacetobacter xylinus isolated from Chinese persimmon vinegar. *Carbohydr. Polym.* 2018, 194, 200–207. [CrossRef]

162. Vu, X.H.; Dien, N.D.; Pham, T.T.H.; Trang, T.T.; Ca, N.X.; Tho, P.T.; Vinh, N.D.; Van Do, P. The sensitive detection of methylene blue using silver nanodecahedra prepared through a photochemical route. *RSC Adv.* 2020, 10, 38974–38988. [CrossRef]

163. Soliwoda, K.; Tomaszewksa, E.; Socha, E.; Krzyczmonik, P.; Ignaczak, A.; Orlowski, P.; Krzyzowska, M.; Celichowski, G.; Grobelny, J. The role of tannic acid and sodium citrate in the synthesis of silver nanoparticles. *J. Nanopart. Res.* 2017, 19, 1–15. [CrossRef]

164. Gui, R.; Jin, H. Recent advances in synthetic methods and applications of photo-luminescent molecularly imprinted polymers. *J. Photochem. Photobiol. C Photobiol. Rev.* 2019, 41, 100315. [CrossRef]

165. Al-Saedy, M.A.; Ali, A.A.; Sabah, R.; Hamed, W.M.; Kafi, M. Preparation method of silver nano particles. *Adv. Sci. Technol.* 2020, 3, 1–8.

166. Singh, S. Synthesis of nanoparticles for biomedical applications. In *Nanotoxicology: Experimental and Computational Perspectives*; Dhawan, A., Anderson, D., Shanker, R., Eds.; Royal Society of Chemistry: London, UK, 2017; pp. 39–93.

167. Krce, L.; Šprung, M.; Maravić, A.; Umek, P.; Salamon, K.; Krstulović, N.; Aviani, I. Bacteria Exposed to Silver Nanoparticles particle size at nanoscale. *Sci. Rep.* 2020, 10, 7163. [CrossRef]

168. Haque, M.A.; Imamura, R.; Brown, G.A.; Krishnamurthi, V.R.; Niyonshuti, I.I.; Marcelle, T.; Mathurin, L.E.; Chen, J.; Wang, Y. An experiment-based model quantifying antimicrobial activity of silver nanoparticles on Escherichia coli. *RSC Adv.* 2017, 7, 56173–56182. [CrossRef]

169. Sathiyaseelan, A.; Saravanakumar, K.; Mariadoss, A.V.A.; Wang, M.-H. Biocompatible fungal chitosan encapsulated phytoantioxidant silver nanoparticles enhanced antioxidative, antioxidant and antibacterial activity. *Int. J. Biol. Macromol.* 2020, 153, 63–71. [CrossRef]

170. Blasco, L.; Ambroa, A.; Trastoy, R.; Blériot, I.; Moscoso, M.; Fernández-García, L.; Perez-Nadales, E.; Fernández-Cuenca, F.; Torre-Cisneros, J.; Oteo-Iglesias, J.; et al. In vitro and in vivo efficacy of combinations of colistin and different endolysins against clinical strains of multi-drug resistant pathogens. *Sci. Rep.* 2020, 10, 7163. [CrossRef]

171. Jusuf, S.; Hui, J.; Dong, P.-T.; Cheng, J.-X. Staphyloxanthin Photolysis Potentiates Low Concentration Silver Nanoparticles in Eradication of Methicillin-Resistant Staphylococcus aureus. *J. Phys. Chem. C* 2020, 124, 5321–5330. [CrossRef]

172. Parasuraman, P.; Thammana, R.Y.; Shaji, C.; Sharan, A.; Bakhali, A.H.; Al-Harthi, H.F.; Syed, A.; Anju, V.; Dyavaiah, M.; Siddhardha, B. Biogenic Silver Nanoparticles Decorated with Methylene Blue Potentiated the Photodynamic Inactivation of Pseudomonas aeruginosa and Staphylococcus aureus. *Pharmaceutics* 2020, 12, 709. [CrossRef][PubMed]

173. Malaekheh-Nikouei, B.; Bazzaz, B.S.F.; Mirhadi, E.; Tajani, A.S.; Khameneh, B. The role of nanotechnology in combating biofilm-based bacterial resistance. *J. Drug Deliv. Sci. Technol.* 2020, 60, 101880. [CrossRef]

174. Hashemi, Z.; Mortazavi-Derazkola, S.; Biparva, P.; Goli, H.R.; Sadeghian, F.; Kardan, M.; Rafiei, A.; Ebrahimzadeh, M.A. Green Synthesized silver nanoparticles using Feijoa Sellowiana leaf extract, evaluation of their antibacterial, anticancer and antioxidant activities. *Iran. J. Pharm. Res.* 2020, 19, 306–320. [CrossRef]

175. Tavakolizadeh, M.; Pourjavadi, A.; Ansari, M.; Tebyanian, H.; Tabaei, S.J.S.; Atarod, M.; Rabiee, N.; Bagherzadeh, M.; Varma, R.S. An environmentally friendly wound dressing based on a self-healing, extensible and compressible antibacterial hydrogel. *Green Chem.* 2021, 23, 1312–1329. [CrossRef]

176. Abdalla, S.S.I.; Katas, H.; Azmi, F.; Busra, M.F.M. Antibacterial and Anti-Biofilm Biosynthesized Silver and Gold Nanoparticles for Medical Applications: Mechanism of Action, Toxicity and Current Status. *Curr. Drug Deliv.* 2020, 17, 88–100. [CrossRef]

177. Majeed, S.; Danish, M.; Zahrudin, A.H.B.; Dass, G.K. Biosynthesis and characterization of silver nanoparticles from fungal species and its antibacterial and anticancer effect. *Karbala Int. J. Mod. Sci.* 2018, 4, 86–92. [CrossRef]

178. Besinis, A.; De Peralta, T.; Handy, R.D. The antibacterial effects of silver, titanium dioxide and silica dioxide nanoparticles compared to the dental disinfectant chlorhexidine on Streptococcus mutans using a suite of bioassays. *Nanotoxicology* 2014, 8, 1–16. [CrossRef]

179. Aghioutiti, S.; Mukherji, S.; Mukherji, S. Immobilized silver nanoparticles enhance contact killing and show highest efficacy: Elucidation of the mechanism of bactericidal action of silver. *Nanoscale* 2013, 5, 7328–7340. [CrossRef]

180. Khurana, C.; Vala, A.; Andhriya, N.; Pandey, O.P.; Chudasama, B. Antibacterial activity of silver: The role of hydrodynamic particle size at nanoscale. *J. Biomed. Mater. Res. Part A* 2014, 102, 3361–3368. [CrossRef]

181. Hamad, A.; Khashan, K.S.; Hadi, A. Silver Nanoparticles and Silver Ions as Potential Antibacterial Agents. *J. Inorg. Organomet. Polym. Mater.* 2020, 30, 4811–4828. [CrossRef]
182. Ebrahimzadeh, M.A.; Naghzideh, A.; Amiri, O.; Shirzadi-Ahodashti, M.; Mortazavi-Derazkola, S. Green and facile synthesis of Ag nanoparticles using Crataegus pentagyna fruit extract (CP-AgNPs) for organic pollution dyes degradation and antibacterial application. *Bioorg. Chem.* 2020, 94, 103425. [CrossRef]

183. Guerra, J.D.; Sandoval, G.; Avalos-Borja, M.; Pestreyaev, A.; Garibo, D.; Susarrey-Arce, A.; Bogdanchikova, N. Selective antifungal activity of silver nanoparticles: A comparative study between Candida tropicalis and Saccharomyces boulardii. *Colloid Interface Sci. Commun.* 2020, 37, 100280. [CrossRef]

184. Boral, H.; Metin, B.; Dögen, A.; Seyedmoussavi, S.; Ilkit, M. Overview of selected virulence attributes in Aspergillus fumigatus, Candida albicans, Cryptococcus neoformans, Trichophyton rubrum, and Exophiala dermatitidis. *Fungal Genet. Biol.* 2018, 111, 92–107. [CrossRef]

185. Esteban-Tejeda, L.; Malpartida, F.; Esteban-Cubillo, A.; Pecharromán, C.; Moya, J.S. The antibacterial and antifungal activity of a soda-lime glass containing silver nanoparticles. *Nanotechnology* 2009, 20, 085103. [CrossRef]

186. Omran, B.A. Inspired biological synthesis of nanomaterials using Eukaryotic microbial nano-machine. In *Nanobiotechnology: A Multidisciplinary Field of Science*; Springer: New York, NY, USA, 2020; pp. 81–109. [CrossRef]

187. Elamawi, R.M.; Al-Harbi, R.E.; Hendi, A.A. Biosynthesis and characterization of silver nanoparticles using Trichoderma longibrachiatum and their effect on phytopathogenic fungi. *Egypt. J. Biol. Pest Control.* 2018, 28, 28. [CrossRef]

188. Atiq, M.; Naemi, I.; Sahi, S.T.; Rajput, N.A.; Haider, E.; Usman, M.; Shabbaz, H.; Fatima, K.; Arif, E.; Qayyum, A. Nanoparticles: A safe way towards fungal diseases. *Arch. Phytopathol. Plant Protect.* 2020, 53, 781–792. [CrossRef]

189. Win, T.T.; Khan, S.; Fu, P. Fungus- (Alternaria sp.) Mediated Silver Nanoparticles Synthesis, Characterization, and Screening of Antifungal Activity against Some Phytopathogens. *J. Nanotechnol.* 2020, 2020, 1–9. [CrossRef]

190. Xia, M.-Y.; Xie, Y.; Yu, C.-H.; Chen, G.-Y.; Li, Y.-H.; Zhang, T.; Peng, Q. Graphene-based nanomaterials: The promising active agents for antibiotics-independent antibacterial applications. *J. Control. Release* 2019, 307, 16–31. [CrossRef] [PubMed]

191. Verma, P.; Maheshwari, S.K. Applications of Silver nanoparticles in diverse sectors. *Int. J. Nano Dimens.* 2019, 10, 18–36.

192. Teirumnieks, E.; Balchev, I.; Ghalot, R.S.; Lazov, L. Antibacterial and anti-viral effects of silver nanoparticles in medicine against COVID-19—A review. *Laser Phys. 2020, 31, 013001.* [CrossRef]

193. Zyldiz, F.; Seydibeyoglu, E.A.; Seydibeyoglu, M.O. The role of nanotechnology for antimicrobial agents. In *Coronology: Multidisciplinary Academic Analysis in Perspective of Covid-19*; Sciendo: Warsaw, Poland, 2021; pp. 170–185.

194. Saxena, R.; Fouad, H.; Srivastava, S. Clinical study of the treatment of Klebsiella pneumoniae with comprehensive nursing intervention combined with new nano silver. *J. Nanosci. Nanotechnol.* 2020, 20, 6063–6069.

195. Reina, G.; Peng, S.; Jacquemin, L.; Andrade, A.F.; Bianco, A. Hard Nanomaterials in Time of Viral Pandemics.

196. Fayaz, A.M.; Ao, Z.; Chen, L.; Kalaichelvan, P.; Girilal, M.; Xiao, Y.; Yao, X. Inactivation of microbial infectiousness by silver nanoparticles: A new approach to inhibit HIV- and HSV-transmitted infection. *Int. J. Nanomed.* 2012, 7, 5007–5018. [CrossRef]

197. Lal, H.M.; Uthaman, A.; Thomas, S. Silver Nanoparticle as an Effective Antiviral Agent. In *Polymer Nanocomposites Based on Silver Nanoparticles*; Lal, H.M., Thomas, S., Li, T., Maria, H.J., Eds.; Springer: Berlin/Heidelberg, Germany, 2021; pp. 247–265.

198. Kara, H.H.; Ayala-Nuñez, N.V.; Ixtel-Turrent, L.; Rodriguez-Padilla, C. Mode of antiviral action of silver nanoparticles against HIV-1. *J. Nanobiotechnol.* 2010, 8, 1. [CrossRef] [PubMed]

199. Treffry, J.C.; Wooley, D.P. Silver nanoparticles inhibit vaccinia virus infection by preventing viral entry through a macrophocytosis-dependent mechanism. *J. Biomed. Nanotechnol.* 2013, 9, 1624–1635. [CrossRef]

200. Pilaquinga, F.; Morey, J.; Torres, M.; Seqqat, R.; Piña, M.D. Silver nanoparticles as a potential treatment against SARS-CoV-2: A review. *Wiley Interdiscip. Rev. Nanomed. Nanobiotechnol.* 2021, 13, e1707. [CrossRef]

201. Galdiero, S.; Rai, M.; Gade, A.; Falanga, A.; Incoronato, N.; Russo, L.; Galdiero, M.; Gaikwad, S.; Ingle, A. Antiviral activity of mycosynthesized silver nanoparticles against herpes simplex virus and human parainfluenza virus type 3. *Int. J. Nanomed.* 2013, 8, 4303–4314. [CrossRef]

202. Elbeshehy, E.K.F.; Elazzazy, A.M.; Aggelis, G. Silver nanoparticles synthesis mediated by new isolates of Bacillus spp., nanoparticle characterization and their activity against Bean Yellow Mosaic Virus and human pathogens. *Front. Microbiol.* 2015, 6, 453. [CrossRef]

203. Kisseleva, T; Brenner, D. Molecular and cellular mechanisms of liver fibrosis and its regression. *Nat. Rev. Gastroenterol. Hepatol.* 2020, 18, 151–166. [CrossRef]

204. Wong, C.K.; Cheung, P.F.; Ip, W.K.; Lam, C.W. Intracellular signaling mechanisms regulating toll-like receptor-mediated activation of eosiophils. *Am. J. Respir. Cell Mol. Biol.* 2007, 37, 85–96. [CrossRef]

205. Tao, B.; Xiang, W.; Li, X.; He, C.; Chen, L.; Xia, X.; Peng, T.; Peng, L.; Yang, X.; Zhong, C. Regulation of Toll-like receptor-mediated inflammatory response by microRNA-152-3p-mediated demethylation of MyD88 in systemic lupus erythematosus. *Inflamm. Res.* 2021, 70, 1–12. [CrossRef]

206. Gestal, M.C.; Blas-Machado, U.; Johnson, H.M.; Rubin, L.N.; Dewan, K.K.; Bryant, C.; Tiemeyer, M.; Harville, E.T. Disrupting Bordetella immunosuppression reveals a role for Eosinophils in coordinating the adaptive immune response in the respiratory tract. *Microorganisms* 2020, 8, 1808. [CrossRef]

207. Siczek, Z.; Zatorski, H.; Fichna, J. Silver and Other Metals in the Treatment of Gastrointestinal Diseases. *Curr. Med. Chem.* 2015, 22, 3695–3706. [CrossRef]
208. Tian, J.; Wong, K.K.Y.; Ho, C.-M.; Lok, C.-N.; Yu, W.-Y.; Che, C.M.; Chiu, J.-F.; Tam, P.K.H. Topical Delivery of Silver Nanoparticles Promotes Wound Healing. *ChemMedChem* **2007**, *2*, 129–136. [CrossRef]

209. David, L.; Moldovan, B.; Vulcu, A.; Olenic, L.; Perde-Schrepler, M.; Fischer-Fodor, E.; Florea, A.; Crisan, M.; Chiorean, I.; Cliciuc, S.; et al. Green synthesis, characterization and anti-inflammatory activity of silver nanoparticles using European black elderberry fruits extract. *Colloids Surf. B: Biointerfaces* **2014**, *122*, 767–777. [CrossRef] [PubMed]

210. Xiang, D.X.; Zheng, Y.; Duan, W.; Li, X.; Yin, J.; Shigdar, S.; O’Connor, M.L.; Marappan, M.; Zhao, X.; Miao, Y.; et al. Inhibition of A/Human/Hubei/3/2005 (H3N2) influenza virus infection by silver nanoparticles in vitro and in vivo. *Int. J. Nanomed.* **2013**, *8*, 4031–4043. [CrossRef]

211. Nicolini, G.; Forini, F.; Kusmic, C.; Iervasi, G.; Balzan, S. Angiopoietin 2 signal complexity in cardiovascular disease and cancer. *Life Sci.* **2019**, *239*, 117080. [CrossRef] [PubMed]

212. Guarischi-Sousa, R.; Monteiro, J.S.; Alecrim, L.C.; Michaloski, J.S.; Cardeal, L.B.; Ferreira, E.; Carraro, D.M.; Nunes, D.N.; Dias-Neto, E.; Reimand, J.; et al. A transcriptome-based signature of pathological angiogenesis predicts breast cancer patient survival. *PLoS Genet.* **2020**, *15*, e1008482. [CrossRef] [PubMed]

213. Di Pietro, P.; Zimbone, S.; Grasso, G.; La Mendola, D.; Cossement, D.; Snyders, R.; Satriano, C. A Multifunctional Nanoplatform Made of Gold Nanoparticles and Peptides Mimicking the Vascular Endothelial Growth Factor. *Appl. Sci.* **2021**, *11*, 6333. [CrossRef]

214. Ullah, I.; Khalil, A.T.; Ali, M.; Iqbal, J.; Ali, W.; Alarifi, S.; Shinwari, Z.K. Green-Synthesized Silver Nanoparticles Induced Apoptosis in Human Cervical Cancer Cells. *Int. J. Nanomed.* **2019**, *14*, 5135. [CrossRef] [PubMed]

215. Tavakolpour, S.; Karami, F. Cancer nanomedicine: Special focus on cancer immunotherapy. In *Cancer Nanomedicine: Special Focus on Cancer Immunotherapy*; Rezaei, N., Ed.; Springer: Copenhagen, Denmark, 2020; pp. 465–508. [CrossRef]

216. Murugesan, K.; Koroth, J.; Srinivasan, P.P.; Singh, A.; Mukundan, S.; Karki, S.S.; Choudhary, B.; Gupta, C.M. Effects of green synthesised silver nanoparticles (ST06-AgNPs) using curcumin derivative (ST06) on human cervical cancer cells (HeLa) in vitro and EAC tumor bearing mice models. *Int. J. Nanomed.* **2019**, *14*, 5257. [CrossRef]

217. Gurunathan, S.; Jeong, J.-K.; Han, J.W.; Zhang, X.-F.; Park, J.H.; Kim, J.-H. Multidimensional effects of biologically synthesized silver nanoparticles in Helicobacter pylori, Helicobacter felis, and human lung (L132) and lung carcinoma A549 cells. *Nanoscale* **2015**, *7*, 839–849. [CrossRef] [PubMed]

218. Boca, S.; Potara, M.; Gabudean, A.-M.; Juhem, A.; Baldeck, P.; Astilean, S. Chitosan-coated triangular silver nanoparticles as a novel class of biocompatible, highly effective photothermal transducers for in vitro cancer cell therapy. *Cancer Lett.* **2021**, *420*, 131–140. [CrossRef]

219. Guo, D.; Zhu, L.; Huang, Z.; Zhou, H.; Ge, Y.; Ma, W.; Wu, J.; Zhang, X.; Zhou, X.; Zhang, Y.; et al. Anti-leukemia activity of PVP-coated silver nanoparticles via generation of reactive oxygen species and release of silver ions. *Biomaterials* **2013**, *34*, 7884–7894. [CrossRef] [PubMed]

220. Guerinathan, S.; Han, J.W.; Dayem, A.A.; Eppakayala, V.; Park, J.H.; Cho, S.G.; Lee, K.J.; Kim, J.H. Green synthesis of anisotropic silver nanoparticles and its potential cytotoxicity in human breast cancer cells (MCF-7). *J. Ind. Eng. Chem.* **2013**, *19*, 1600–1605. [CrossRef]

221. Guerinathan, S.; Han, J.W.; Eppakayala, V.; Jeyaraj, M.; Kim, J.-H. Cytotoxicity of Biologically Synthesized Silver Nanoparticles in MDA-MB-231 Human Breast Cancer Cells. *BioMed Res. Int.* **2013**, *2013*, 535796. [CrossRef]

222. Locatelli, E.; Naddaka, M.; Ubaldi, C.; Loudos, G.; Fragogeorgi, E.; Molinari, V.; Pucci, A.; Tisotakos, D.; Pongi, J.; et al. Targeted delivery of silver nanoparticles and alisertib: In vitro and in vivo synergistic effect against glioblastoma. *Nanomedicine* **2014**, *9*, 839–849. [CrossRef] [PubMed]

223. Yusuf, M. Silver nanoparticles: Synthesis and applications. *Handb. Econat.* **2018**, 2343. [CrossRef]

224. Chan, C.M.; Hsiao, C.Y.; Li, H.J.; Fang, J.Y.; Chang, D.C.; Hung, C.F. The inhibitory effects of gold nanoparticles on VEGF-a-induced cell migration in Choroid-retina Endothelial cells. *Int. J. Mol. Sci.* **2019**, *21*, 109. [CrossRef]
231. Liu, F.; Yang, J.; Zuo, J.; Ma, D.; Gan, L.; Xie, B.; Wang, P.; Yang, B. Graphene-supported nanoscale zero-valent iron: Removal of phosphorus from aqueous solution and mechanistic study. J. Environ. Sci. 2014, 26, 1751–1762. [CrossRef] [PubMed]

232. Tang, W.-W.; Zeng, G.-M.; Gong, J.-L.; Liang, J.; Xu, P.; Zhang, C.; Huang, B. Impact of humic/fulvic acid on the removal of heavy metals from aqueous solutions using nanomaterials: A review. Sci. Total Environ. 2014, 468, 1014–1027. [CrossRef] [PubMed]

233. Yan, J.; Han, L.; Gao, W.; Xue, S.; Chen, M. Biochar supported nanoscale zerovalent iron composite used as persulfate activator for removing trichloroethylen. Biosensour. Bioelectron. 2015, 75, 269–274. [CrossRef]

234. Kalhapure, R.S.; Sonawane, S.J.; Srikwal, D.; JadHAV, M.; Rambharose, S.; Mocktar, C.; Govender, T. Solid lipid nanoparticles of 3-lotrimazole silver complex: An efficient nano antibacterial against Staphylococcus aureus and MRSA. Colloids Surf. B Biointerfaces 2015, 136, 651–658. [CrossRef]

235. Li, X.; Lenhart, J.J.; Walker, H.W. Aggregation Kinetics and Dissolution of Coated Silver Nanoparticles. Langmuir 2011, 28, 1095–1104. [CrossRef] [PubMed]

236. Quang, D.V.; Sarawade, P.; Jeon, S.J.; Kim, S.H.; Kim, J.-K.; Chai, Y.G.; Kim, H.T. Effective water disinfection using silver nanoparticle containing silica beads. Appl. Surf. Sci. 2013, 266, 280–287. [CrossRef]

237. Dankovich, T.A.; Gray, D.G. Bactericidal Paper Impregnated with Silver Nanoparticles for Point-of-Use Water Treatment. Environ. Sci. Technol. 2011, 45, 1992–1998. [CrossRef] [PubMed]

238. Ren, D.; Smith, J.A. Retention and transport of silver nanoparticles in a ceramic porous medium used for point-of-use water treatment. Environ. Sci. Technol. 2013, 47, 3825–3832. [CrossRef]

239. Zdrowk, K.; Brunet, L.; Mahendra, S.; Li, D.; Zhang, A.; Li, Q.; Alvarez, P.J. Polysulfone ultrafiltration membranes impregnated with silver nanoparticles showed improved biofouling resistance and virus removal. Water Res. 2009, 43, 715–723. [CrossRef]

240. Li, Q.; Mahendra, S.; Lyon, D.; Brunet, L.; Liga, M.V.; Li, D.; Alvarez, P.J. Antimicrobial nanomaterials for water disinfection and microbial control: Potential applications and implications. Water Res. 2008, 42, 4591–4602. [CrossRef] [PubMed]

241. Que, Z.G.; Torres, J.G.T.; Vidal, H.P.; Rocha, M.A.L.; Pérez, J.C.A.; López, I.C.; Romero, D.D.L.C.; Reyna, A.E.; Sosa, J.G.P.; Pavón, A.A.S.; et al. Application of silver nanoparticles for water treatment. In Silver Nanoparticles—Fabrication, Characterization and Applications; Khan, M., Ed.; IntechOpen: London, UK, 2018. [CrossRef]

242. Guerra-Que, Z.; Torres, J.G.T.; Vidal, H.P.; Cuauhtémoc, I.; Monteros, A.E.D.L.; Beltraminì, J.; Friás-Márquez, D.M. Silver nanoparticles supported on zirconia–ceria for the catalytic wet air oxidation of methyl tert-butyl ether. RSC Adv. 2017, 7, 3599–3610. [CrossRef]

243. Choi, H.-J.; Kim, K.H. Parametric study of a dyeing wastewater treatment by modified sericite. Environ. Technol. 2016, 37, 2572–2579. [CrossRef]

244. Jin, J.; Zhao, X.; Du, Y.-H.; Ding, M.; Xiang, C.; Yan, N.; Jia, C.; Han, Z.; Sun, L. Nanostructured Three-Dimensional Percolative Channels for Separation of Oil-in-Water Emulsions. iScience 2018, 6, 289–298. [CrossRef]

245. Cao, E.; Duan, W.; Wang, F.; Wang, A.; Zheng, Y. Natural cellulose fiber derived hollow-tubular-oriented poly-dopamine: In-situ formation of Ag nanoparticles for reduction of 4-nitrophenol. Carbohydr. Polym. 2017, 158, 44–50. [CrossRef] [PubMed]

246. Guo, M.; Zhang, Y.; Du, F.; Wu, Y.; Zhang, Q.; Jiang, C. Silver nanoparticles/polydopamine coated polyvinyl alcohol sponge as an effective and recyclable catalyst for reduction of 4-nitrophenol. Mater. Chem. Phys. 2019, 225, 42–49. [CrossRef]

247. Cheng, D.; Zhang, Y.; Liu, Y.; Bai, X.; Ran, J.; Bi, S.; Deng, Z.; Tang, X.; Wu, J.; Cai, G.; et al. Mussel-inspired synthesis of filter cotton-based AgNPs for oil/water separation, antibacterial and catalytic application. Mater. Today Commun. 2020, 25, 101467. [CrossRef]

248. Rani, P.; Kumar, V.; Singh, P.P.; Matharu, A.S.; Zhang, W.; Kim, K.-H.; Singh, J.; Rawat, M. Highly stable AgNPs prepared via a novel green approach for catalytic and photocatalytic removal of biological and non-biological pollutants. Environ. Int. 2020, 143, 105924. [CrossRef] [PubMed]

249. Fiorati, A.; Bellingeri, A.; Punta, C.; Corsi, I.; Venditti, I. Silver Nanoparticles for Water Pollution Monitoring and Treatments: Ecosafety Challenge and Cellulose-Based Hybrids Solution. Polymers 2020, 12, 1635. [CrossRef] [PubMed]

250. Manivannan, S.; Ramaraj, R. Silver nanoparticles embedded in cyclodextrin–silicate composite and their appli-cations in Hg (II) ion and nitrobenzene sensing. Analyst 2013, 138, 1733–1739. [CrossRef]

251. Sharma, P.; Mourya, M.; Choudhary, D.; Goswami, M.; Kundu, I.; Dohal, M.P.; Tripathi, C.S.P.; Guin, D. Thiol terminated chitosan capped silver nanoparticles for sensitive and selective detection of mercury (II) ions in water. Sens. Actuators B Chem. 2018, 268, 310–318. [CrossRef]

252. Melinte, V.; Stroea, L.; Buruiana, T.; Chibac, A.L. Photocrosslinked hybrid composites with Ag, Au or Au-Ag NPs as visible-light triggered photocatalysts for degradation/reduction of aromatic nitroderivatives. Eur. Polym. J. 2019, 121, 109289. [CrossRef]

253. Roy, K.; Sarkar, C.K.; Ghost, C.K. Rapid colorimetric detection of Hg²⁺ ion by green silver nanoparticles syn-thesized using Dahlia pinnata leaf extract. Green Process. Synth. 2015, 4, 455–461. [CrossRef]

254. Bhardwaj, A.K.; Sundaram, S.; Yadav, K.K.; Srivastav, A.L. An overview of silver nano-particles as promising materials for water disinfection. Environ. Technol. Innov. 2020, 23, 101721. [CrossRef]

255. Márquez, J.C.M.; Partida, A.H.; del Carmen, M.; Dosta, M.; Mejía, J.C.; Martínez, J.A.B. Silver nanoparticles applications (AgNPS) in aquaculture. Int. J. Fish. Aquat. Stud. 2018, 6, 5–11. [CrossRef]
257. Ghosh, S.; Singh, B.P.; Webster, T.J. Nanoparticle-impregnated biopolymers as novel antimicrobial nanofilms. In Biopolymer-Based Nano Films; Rai, M., dos Santos, C.A., Eds.; Elsevier: Amsterdam, The Netherlands, 2021; pp. 269–309. [CrossRef]

258. Yang, Y.; Zheng, S.; Li, R.; Chen, X.; Wang, K.; Sun, B.; Zhang, Y.; Zhu, L. New insights into the facilitated dissolution and sulfidation of silver nanoparticles under simulated sunlight irradiation in aquatic environments by extracellular polymeric substances. Environ. Sci. Nano 2021, 8, 748–757. [CrossRef]

259. Paladini, F.; Pollini, M. Antimicrobial Silver Nanoparticles for Wound Healing Application: Progress and Future Trends. Materials 2019, 12, 2540. [CrossRef]

260. Prasath, S.; Palaniappan, K. Is using nanosilver mattresses/pillows safe? A review of potential health implications of silver nanoparticles on human health. Environ. Geochem. Health 2019, 41, 2295–2313. [CrossRef] [PubMed]

261. DeAlba-Montero, I.; Ruiz-Torres, C.A.; Portales-Pérez, D.P.; Martinez-Gutierrez, F.; Echeverría, F.; Compeán-Jasso, M.E.; Cataño-Cañizales, Y.G.; Ruiz, F. Atmospheric corrosion, antibacterial properties, and toxicity of silver nanoparticles synthesized by two different routes. Bioinorg. Chem. Appl. 2020, 2020, 8891069. [CrossRef] [PubMed]

262. Rodríguez-Garraus, A.; Azqueta, A.; Vettorazzi, A.; De Cerain, A.L. Genotoxicity of silver nanoparticles. Nanomaterials 2020, 10, 251. [CrossRef] [PubMed]

263. Budama-Kilinc, Y.; Cakir-Koc, R.; Zorlu, T.; Ozdemir, B.; Karavelioglu, Z.; Egil, A.C.; Kecel-Gunduz, S. Assessment of nanotoxicity and safety profiles of silver nanoparticles. In Silver Nanoparticles—Fabrication, Characterization and Applications; Khan, M., Ed.; IntechOpen: London, UK, 2018; p. 75645.